# Nanotechnology in the COVID-19 era: Carbon-based nanomaterials as a promising solution 

Massimiliano Papi ${ }^{\text {a,b, }}{ }^{* *}$, Marco De Spirito ${ }^{\text {a,b }}$, Valentina Palmieri ${ }^{\text {a,c,* }}$<br>${ }^{\text {a }}$ Fondazione Policlinico Universitario "A. Gemelli" IRCSS, Largo A. Gemelli, 8 00168, Rome, Italy<br>${ }^{\text {b }}$ Dipartimento di Neuroscienze, Università Cattolica del Sacro Cuore, Rome, Largo Francesco Vito 1, 00168, Italy<br>${ }^{\text {c }}$ Istituto dei Sistemi Complessi, CNR, Via dei Taurini 19, 00185, Rome, Italy

## A R T I C L E I N F O

## Keywords:

SARS-CoV-2
Omicron
Graphene
Carbon
Antivirals
Nanomaterials
Nanotechnology


#### Abstract

The Coronavirus Disease 2019 (COVID-19) pandemic has led to collaboration between nanotechnology scientists, industry stakeholders, and clinicians to develop solutions for diagnostics, prevention, and treatment of Severe Acute Respiratory Syndrome Coronavirus 2 (SARS-CoV-2) infections. Nanomaterials, including carbon-based materials (CBM) such as graphene and carbon nanotubes, have been studied for their potential in viral research. CBM unique effects on microorganisms, immune interaction, and sensitivity in diagnostics have made them a promising subject of SARS-CoV-2 research. This review discusses the interaction of CBM with SARS-CoV-2 and their applicability, including CBM physical and chemical properties, the known interactions between CBM and viral components, and the proposed prevention, treatment, and diagnostics uses.


## 1. Introduction

This century has witnessed no other global emergency as critical as the Coronavirus Disease 2019 (COVID-19). Vaccines have successfully controlled this pandemic, nevertheless, as a result of the typical viral capacity to quickly adapt and mutate, the Severe Acute Respiratory Syndrome Coronavirus 2 (SARS-CoV-2) has infected almost 670 million individuals worldwide (January 2023) [1]. The current variant of concern (VoC) Omicron has more than 30 mutations in the spike protein, the outer and first protein encountered by cells and surfaces interacting with the virus. Omicron has also transformed the pathogenic mechanism by using a different cell entry route, i. e reducing cell syncytia and favoring a cellular transmembrane serine protease 2 (TMPRSS2)-independent endosomal entry [1,2].

To control this continuously evolving microorganism, both in terms of structure and mode of infection and spreading, nanotechnology scientists and industry stakeholders have worked with clinicians to create solutions for diagnostics, prevention and treatment [3].

Actually the ongoing SARS-CoV-2 pandemic has highlighted the importance of nanomaterials science in offering new tools for antiviral research (Fig. 1 from Ref. [4]): nanomaterials can limit viral spreading and environmental contamination; nanosensors are extremely sensitive
in diagnostic and finally, nanocarriers can be exploited for treatment and vaccine design.

Among nanoparticles, graphene and more generally carbon-based materials (CBM) have been widely studied in the last 15 years in the field of microbiology. CBM unique mechanisms of interaction with microbial species have initially attracted a broad interest as a possible answer to the antibiotic resistance emergency, and the studies conducted before 2020 have served as a valuable experience for SARS-CoV2 studies [5-8]. Mechanisms of bacteria-killing by CBM involve reactive oxygen species (ROS) generation or membrane disruption [9] and even if viral particles are smaller ( -100 nm vs microns) and lack metabolism, or have a different outer envelope structure compared to bacteria or fungi, we have learned, as nanomaterials scientists, concepts about in vivo protein corona formation [10,11], nanoparticle stability and immune interactions beneficial for SARS-CoV-2 fighting [12-14].

Analyzing literature data on graphene, the primarily studied member of the CBM family, before 2019 and during the last three years of pandemics, we observe a sharp increase in the study of viruses and graphene, graphene sensors or material for personal protective equipment production (Fig. 2). CBM-based sensors in diagnostic are highly advanced and some available sensors might just be modified for SARS-CoV-2 specific antigens.

[^0]In this Review, we will discuss the role of CBM nanomaterials in SARS-CoV-2 research. We will start with the physicochemical characteristics of the SARS-CoV-2 particles, especially size and charge that influence the interaction with cells and with CBM family members, which are an impressive catalog of size and chemistry. We will then examine the described mechanisms of interaction of CBM and SARS-$\mathrm{CoV}-2$ proposed mainly in the last three years of groundwork. Finally, we will report the main applications of cbm in the fields of prevention, screening, diagnostics, and treatment designed explicitly for SARS-CoV2 and analyze the market for this type of materials. We highlight that other Reviews, that will be mentioned in the text, have focused on CBM and viruses in general. Universal knowhow offered by nanotechnology science will play a critical role in the prevention, diagnosis, and treatment of future viral outbursts.

## 2. SARS-CoV-2 physicochemical properties and variants

A detailed comprehension of the SARS-CoV-2 genetic and structural properties is a precondition for ensuring successful medicinal and diagnostic tools based on nanomaterials.

SARS-CoV-2 dimensions are comprised between 60 and $140 \mathrm{~nm}^{16}$, and the capsid has the Coronaviridae typical morphology (Fig. 3 from Ref. [15]). SARS-CoV-2 is an enveloped, positive-strand RNA virus, with distinctive spikes (26-61 in number [16]), about 9-12 nm long, that create the viral corona [15,17]. SARS-CoV-2 RNA genome encodes approximately 27 proteins with common possible roles, and the remaining ones with putative roles.

The SARS-CoV-2 outer charge and geometrical arrangement are of particular interest to study its specific behavior when interacting with nanomaterials.

The SARS-CoV-2 structural proteins are the small envelope (E), matrix and membrane proteins (M), nucleocapsid (N), hemagglutininesterase (HE), and spike (S) glycoprotein [15]. The main roles of the E and M proteins are to build the viral three-dimensional structure, differently, N proteins assemble in the core with the RNA. The S protein plays a main role as the outer layer glycol-molecule and is assembled in trimers that bind receptors and mediate fusion with cell membrane via the two functional subunits named S1 and S2. The S receptor-binding domain (RBD) that binds the angiotensin-converting enzyme 2 (ACE2) on the human cell membrane is in the S1 segment, while the merging of the virus with the host cell membrane is regulated by the bent

| Scopus publications | Totalyear | Num/Total | Increase\% <br> $(2022-23 / 2019)$ |
| :---: | :---: | :---: | :---: |
| Graphene |  |  | $121 \%$ |
| Graphene Coronavirus and/or SARS |  |  | $9600 \%$ |
| Graphene Virus |  |  | $792 \%$ |
| Graphene Bacteria |  |  | 1419 |
| Graphene Sensor |  |  | $138 \%$ |
| Graphene PPE and/or face mask | $-=$ |  | $733 \%$ |

Fig. 2. Literature data on graphene before and after SARS-CoV-2 pandemics from Scopus database. Search has been done in Scopus (January 2023, Publication type: Article). Each point represents the following year: 2019; 2020; 2021; 2022-2023. Words in the first column have been searched in Title-abstract-keyword. Num/total refers to the number of publications per year on the total publications about graphene. Percentage increase (Increase \%) has been calculated comparing publications of 2022-2023 and 2019. (A colour version of this figure can be viewed online.)
conformation of the S2 structure. In the original viral strain, also TMPRSS2 processes the $S$ protein, enabling virus-host membrane interaction [18].

More than ten variants of SARS-CoV-2 have been reported so far, with mutations associated to elusion of the body's natural immune defenses and antibody recognition. In 2022, Omicron became the primary circulating variant and the only VoC [1].

All variants contain the D614G mutation, that enhances both the viral replication and infectivity [1] by increasing the spike protein processing [19]. However, there is no evidence that D614G is related with COVID-19 disease severity or with the SARS-CoV-2 escape from the immune system [1].

Omicron exhibits over 30 mutations along the $S$ structure, primarily in epitopes in the RBD region recognized by immunoglobulins, which might explain why vaccine-induced immunity is less effective $[1,20]$. One more possible explanation for Omicron's quick transmission, is its ability to enter cells through an endosomal pathway that isn't dependent on TMPRSS2. In this way, the virus can more effectively infect cells in the supralaryngeal apparatus, that have lower expression levels of


Fig. 1. Material science helps in the creation and improvement of protective equipment, and supplies techniques and methods for analyzing SARS-CoV-2, such as high-resolution imaging, polymerase chain reaction (PCR) for detection of single nucleotide polymorphism (SNP) as well as protein analysis for virus detection. Furthermore, material science can be employed for the development of vaccine and delivery systems, as well as providing advanced materials for medical instruments like filters for extracorporeal membrane oxygenation (ECMO) machines. Modified with permission from Ref. [4]. (A colour version of this figure can be viewed online.)


Fig. 3. Diagram of the SARS-CoV-2 virion. Reproduced with permission from Ref. [15]. (A colour version of this figure can be viewed online.)

TMPRSS2 [1,21]. From the respiratory upper tract, the virus can be readily scattered and transmitted [22]. On the other hand, the localization implies a less severe disease, which might also due to the less efficacy in interferon response antagonism [23].

The interaction of antimicrobials with microbes, such bacteria, is influenced by the outer structure of the cell membrane both in terms of electrostatic attraction and cell thickness [24]. For example, the silver nanoparticles (negative charge) interact more strongly with the positive residues of the integral membrane proteins on the bacteria surface and cause alteration in structural integrity or physicochemical changes that lead to cell death [25]. The outer surface parameters are also crucial for antiviral agents, thus it is fundamental to observe the physicochemical features of the SARS-CoV-2 virion, which have been resumed in Table 1 from Ref. [16].

The knowledge of the $S$ structure and electric charge distribution on SARS-CoV-2 is essential for the analysis of possible interactions with CBM, given its fundamental role in the adsorption process on surface [16]. It is known that the exposed part of the $S$ protein is electrically positive, while the rest of the protein is negative. The Omicron mutations have collected positive charges in areas exposed to solvents, particularly at the interface for binding of the ACE2 receptor, which has a complementary electrostatic surface. On the other hand, the interfaces between Omicron and neutralizing antibodies have comparable positive charges. Beside the charge distribution at physiological pH (7.4), it was reported that in the endosomal compartment, SARS-CoV-2 evades the neutralizing antibodies through a pH -dependent conformational

Table 1
Physicochemical properties of SARS-CoV-2 reproduced and modified with permission from Ref. [16].

| Quantity (unit) | Value |
| :--- | :--- |
| sVirion core part diameter (nm) | $91 \pm 11$ |
| Membrane thickness (nm) | $5 \pm 1$ |
| Core surface area (nm [2]) | $2.6 \times 10^{4}$ |
| Virion diffusion coefficient $\left(\mathrm{m}^{2} \mathrm{~s}^{-1}\right)$ | $2.7 \times 10^{-10}$ Air |
|  | $5.4 \times 10^{-12}$ Aqueous media |
| S protein |  |
| Molar mass $\left(\mathrm{kg} \mathrm{mol}^{-1}\right)$ | 141.2 |
| Density (kg m ${ }^{-3}$ ) | $1.35 \times 10^{3}$ |
| Molar volume (nm [3]) | $1.7 \times 10^{3}$ |
| Equivalent sphere diameter (nm) | 15 |
| Diffusion coefficient $\left(\mathrm{m}^{2} \mathrm{~s}^{-1}\right)$ | $3.3 \times 10^{-11}$ |
| Length (nm) | $24 \pm 9$ |
| Number per virion | $26-61$ |
| Surface concentration (nm [2]) | $1-2.3 \times 10^{-3}$ |
| Cross-sectional area at the top (nm |  |
| Coverage at the core (dimensionless) | $97-110$ |

masking [26].
Regarding the charge-mediated stability on different solid surfaces, SARS-CoV-2 survives more on plastic and stainless steel than on copper and cardboard. Viruses adsorb to surfaces through two main mechanisms, van der Waals and electrostatic interactions. Viruses tend to be hydrophobic, thus are attracted to metal surfaces (e.g., gold and stainless steel) because of mainly van der Waals and hydrophobic forces. Hydrogen bonding plays a key role in this case, and when surfaces are covered by an aqueous thin film. The bond strength is high in the presence of $-\mathrm{O}-\mathrm{H} \cdots \mathrm{O}$ bonding, particularly in pH environments where the carboxylic acid on the virus is deprotonated ( $\mathrm{pH}>4$ ).

Due to the large size of virus particles and variety of surface proteins, there are multiple positive and negative patches in the pH range $5-8$. Therefore, $-\mathrm{NH}_{2},-\mathrm{NH}_{3}^{+},-\mathrm{COOH}$, and $-\mathrm{COO}^{-}$amino acids groups of S protein drive adsorption onto the solid surfaces through double electrostatic interactions and hydrogen bonding based on the surface characteristics.

Fig. 4, from a recent Review about SARS-CoV-2 adsorption on surfaces, outlines the possible interactions that can occur among capsids and materials interfaces varying pH and chemical groups. At pH values below the isoelectric point (for many viruses below 7 [27]), the overall charge of SARS-CoV-2 is positive, given that both the carboxylate and amine groups are protonated, and hydrogen bonding would be formed to hydroxyl-containing surfaces such as wood, cotton, or paper (Fig. 4A). At pH above the isoelectric point (Fig. 4B), the outer surface is deprotonated and therefore negative, accordingly, lower virus adsorption occurs. At higher pH , negative charge interacts strongly with cations that create a thinner double layer and lower repulsion forces, and again possible hydrogen bonding is formed to surface hydroxyl groups, which results in increased adsorption [28]. On surfaces coated with water, the virions form robust interactions through hydrogen bonding with the water layer. The water molecules can also occupy the spaces between closely positioned viral particles up to a distance that is determined by the humidity level [28].

## 3. Carbon nanomaterials family: size, shape and biological identity

The size, shape and charge of nanomaterials heavily determine the nature of their interaction with biological entities (microbes and eukaryotic cells) and in vivo distribution [29,30] (Fig. 5 from Ref. [31]). These interactions and in vivo outcomes are also influenced by the biological identity that CBM after absorption of macromolecules on their surface in body fluids, the so-called biomolecular corona [31]. The biomolecular corona of proteins, lipids, and carbohydrates dramatically


Fig. 4. Molecular Interactions of SARS-CoV-2 on several surfaces Interfaces (A) below the isoelectric point; (B) above the isoelectric point in presence of external ions; (C) below the isoelectric point in the presence of potential chemistries with negative surface charge. Reproduced with permission from Ref. [28]. (A colour version of this figure can be viewed online.)


Fig. 5. Nanomaterial features that influence interaction with biological systems. Reproduced with permission under the terms and conditions of the Creative Commons Attribution (CC BY) license from Ref. [31]. (A colour version of this figure can be viewed online.)
changes the surface of nanomaterials causing an increase or decrease in internalization, toxicity, and antimicrobial activity as well as colloidal stability over time [32].

In this Chapter, we will compare the shape and size features of CBM family members that influence interactions with SARS-CoV-2 discussed in Chapter 3. For discussion on how the in vivo effects might be influenced by the intermediation of the biomolecular corona on the surface of CBM, we refer to specific literature on corona formation on graphene and derivatives [11,33,34], carbon nanotubes [35], and other members
of the CBM family [10,36,37].
The CBM family comprises several geometries from the approximately spherical nanodiamonds and fullerenes, up to the famous bidimensional carbon flake, graphene (Fig. 6) [38]. The size of CBM ranges from the very small fullerene C60 and carbon dots up to the micrometric length of carbon nanotubes and lateral size of graphene.

Fullerene C60 is a highly symmetrical sphere (diameter of $\sim 1 \mathrm{~nm}$ ) of carbon atoms. It can be synthesized by laser or heat-induced evaporation of graphite, or by direct bottom-up chemical synthesis from small


Fig. 6. An overview of carbon nanomaterials. Reprinted with permission from Ref. [38] Copyright (2015) American Chemical Society.
aromatic molecules. Although insoluble in water, C60 can be functionalized with hydrophilic surface groups and antibodies for selective targeting. The C60 nanometer-sized molecules possess various unconventional capabilities for imaging and drug/gene delivery, together with the photoexcitation capability that allows the transfer of stored energy to the surrounding oxygen molecules creating ROS [38].

Besides fullerenes, the sp2 carbon atoms can also form single-walled carbon nanotubes (SWCNTs) and multiple-walled carbon nanotubes (MWCNTs) where each "wall" is a single graphene sheet rolled up into a nanocylinder. The length of CNTs is in the micrometers range with a diameter between 10 and 100 nm [39,40]. The carbon nanotubes are metallic or semiconducting and have a band gap energy according to the direction along which the graphene sheet rolls up with respect to the 2D honeycomb lattice, and the diameter of the tube. Several biomedical imaging applications have been demonstrated for SWCNT especially, since they absorb photons in the visible (400-750 nm) and near-infrared (NIR) window NIR-I (750-1000 nm) windows, for photothermal and photodynamic therapy and as fluorophores. Aside from this, CNTs have also been reported to possess exceptional mechanical properties that allow for tissue scaffolding, and interesting chemical properties that make them efficient delivery carriers for nucleic acids [38].

Graphene is an atomically thin nanomaterial that consists of hexagonally arranged carbon atoms with sp2 hybridization in two dimensions, with a large surface area (from nm [2] to $\mu \mathrm{m}^{2}$ ), high mechanical flexibility, and capability of chemical functionalization. There have been an increasing number of studies on the use of graphene and graphene oxide (GO) for various biological and medical applications including biosensing, imaging, and therapy. A wide spectrum of biomolecules, including glucose, DNA and cholesterol, have been successfully detected with high sensitivity using graphene sensors [41]. Besides the electronic properties of graphene, the distinctive optical properties of GO allow for biomedical imaging and photothermal therapies. The large surface area of graphene family materials, along with the delocalized $\pi$-electrons on its surface, have made graphene and its derivatives good candidates for loading and delivering drugs. Graphene also has excellent mechanical properties, including superior elasticity and high flexibility, allowing the graphene to conform to any substrate with an arbitrary shape and reinforce the structure and morphology of engineered tissues [38].

Carbon dots or graphene quantum dots resemble graphene but have a size below 10 nm and various degrees of oxidation. Carbon dots have fluorescence in a broad range from deep ultraviolet, to the NIR. The fluorescence peak emission wavelength can be tuned allowing a wide range of imaging applications in vitro and in vivo as well as drug delivery, and photodynamic therapy due to their small size and easy penetration of cells [38].

Given their small size, carbon dots have been applied for analysis of SARS-CoV-2 cell entry process by creating pseudovirions for imaging by fluorescence microscopy [42,43].

Nanodiamonds (ND) are an emerging class of new carbonaceous nanomaterials with many fascinating optical, mechanical, and chemical
properties. Unlike all the other classes of nanomaterials consists of sp3 carbon atoms and a size comprised between 2 and 10 nm . ND are used for bioimaging and therapy purposes, being highly photostable, highly biocompatible, and nontoxic [38].

Other less-studied geometries include Carbon Onions and Carbon Nanocones [44,45]. Carbon onions are carbon particles with a size below 10 nm and a closely spherical shape made of fullerene-like carbon shells [46]. Applications of Carbon Onions include tissue engineering [47] and drug delivery for brain targeting [48].

Carbon nanocones are conically shaped carbon nanoparticles firstly synthesized by vapor condensation of carbon atoms on a graphite substrate [45]. Different numbers of pentagons can arrange from the seed from which it grew: disks (no pentagons), five types of cones (one to five pentagons), and open tubes (six pentagons). Nanocones have been employed as nanofiller in polymers [49] having high surface area, electrical conductivity, glass transition temperature, thermal and mechanical properties, specific capacitance, and photovoltaic properties.

For small nanoparticles, the larger the surface-volume ratio the higher their toxicity, and so the probable mode of interaction with microbes [25]. The higher area-to-volume ratio characteristic of non-spherical nanomaterials crucially influences the generation of ROS, the nanomaterial distribution in biofilms and their activity in viscous body fluids [29,50,51]. Size and shape have been crucial also for the synergistic effects of silver nanoparticles and drugs [52]. Shape-related antimicrobial properties have been reported for different nanomaterials, including carbon, silver and gold nanomaterials, though studies on shape relationship with antiviral activity are more focused on bacteria rather than viruses. Indeed non-spherical nanomaterials, having sharp edges and a high aspect ratio generate local stress and membrane rupture in bacteria [29,50,51].

As for any nanomaterial to be used in living organisms, water solubility needs to be maintained mainly by surface functionalization. Fullerenes are typically covalently functionalized through chemical reactions directly with the carbon atoms in the sp2 carbon shell, using a library of standard chemical reactions. CNT and graphene, both of which feature continuous graphitic honeycomb, can be either covalently or noncovalently functionalized. Carbon dots are by nature rich in -OH and -COOH functional groups, which can easily form hydrogen bonds with water molecules and thus have good solubility, however PEG can increase their biocompatibility. ND, on the other hand, are similar to carbon nanotubes and graphene in that both noncovalent and covalent functionalizations [38]. To increase the stability of 2D materials, also proteins like bovine serum albumin can be used as a dispersant agent.

It is worth mentioning that the instability of CBM like graphene or graphene oxide has been exploited for the so-called trapping mechanism: the complete enwrapping of viral or bacterial particles/cells to avoid the spread in the environment. This mechanism has been demonstrated also for graphene oxide interaction with SARS-CoV-2 [53].

## 4. Mechanisms of SARS-CoV-2 inactivation by CBM

Because viruses do not possess metabolic or signaling abilities, their replication relies entirely on the functions of the host cells. Upon attaching to the cell, SARS-CoV-2 gains entry and releases its viral RNA. Within the cell, the virions control the macromolecular machinery to produce RNA and synthesize structural proteins, which then assemble and are released from the host [4].

The opportunities for blocking viral infections include the uptake/ penetration targeting, by interfering with the cell metabolism, critical for viral assembly [54]. In this chapter, we will discuss first the interference of nanomaterials with viral proteins, then we will move to the damaging of viral structure by ROS generation and finally, we will describe the nanomaterials useful to target the human immune response.

### 4.1. CBM interfering with viral structure in solution and on surfaces

Studies of CBM interaction with viral proteins, especially the exposed $S$ protein, are essential for diagnostic, chemical functionalization, and medical purposes. Indeed CBM might induce protein denaturation after adsorption and rearrangement of buried residues [55,56].

Graphene and GO represent the most studied materials of the CBM family. Yan and colleagues have examined graphene effects on the spike protein of wild type (WT) and Omicron variant in the two states reported for this protein, the open and closed states in solution [57]. When the spike protein is in the closed state, three RBDs (S1 subunit) are in the down conformation, whereas in the open state, one or two of the three RBDs are in the up conformation and can bind to ACE2 [58].

In the closed state, graphene can insert into the region between the RBD and the $N$-terminal domain in wild type and Omicron variants, keeping the RBD in the down conformation [57]. In the open state, graphene can hamper the binding of up RBD to ACE2 in WT, but in Omicron variant, it has little impact on up RBD or can either stimulate the down-to-up transition of down RBDs. This may increase the infection ability of Omicron. However, it should be pointed out that the size of the graphene flakes is important in this mechanism.

When the size of graphene is $5.0 \times 5.0 \mathrm{~nm}^{2}$, compared to $3.0 \times 3.0$ $\mathrm{nm}^{2}$, differences were not significative [57]. The same authors hypothesize that very small graphene flakes $\left(1.0 \times 1.0 \mathrm{~nm}^{2}\right)$ can bind everywhere in the spike protein, with a small effect on its function.

However graphene quantum dots, that can be considered the tiniest graphene flakes, might block viral entry and viral enzymes if functionalized with triazole heteroatom and co-doped [59]. Also carbon quantum dots attached with $\alpha$-defensin HNP1 or cathelicidin LL-37 are able to inhibit the virions intake hindering RBD binding with ACE2 [60] and carbon quantum dots activated with boronic acids are able to interact and inhibit human Coronavirus [61].

On graphene surfaces, both RBD and whole $S$ protein have been studied. The RBD interaction is irreversible and based on quick $\pi-\pi$ stacking and hydrophobic interactions. Residue PHE486 with benzene ring has stronger adsorption force and the maximum contact area. Graphene significantly affects the secondary structure of RBD, especially the three key sites of binding with ACE2, GLY476, PHE486 and ASN487 [62].

S-protein secondary structures display only minor changes with only one $\alpha$-helix of the RBD transformed into a turn after interaction with graphene. The authors concluded that although no significant changes have been observed in the secondary and tertiary structure of the Sprotein, the feasibility of the changes in the quaternary structure of the spike protein trimer should not excluded [63].

Graphene is unstable in solution and tends to aggregate into multilayers. Molecular docking studies have shown that seven layered graphene, that has an increasing number of edge sp3 -type carbon, providing greater curvature, further increases the surface reactivity responsible for high binding efficiency of SARS-CoV-2 virions [64]. Therefore the effect of graphene edges or planar surfaces seems quite
different on the $S$ protein, however on graphene deposited on surfaces, the availability of edges might be increased by laser printing, magnetic field, or plasma-enhanced chemical vapor deposition techniques that reorientate flakes [65-68].

Another study analysed the interaction of graphene, P-doped graphene, and functionalized p-doped graphene with SARS-CoV-2 spike proteins and ACE2 receptors [69]. A marked effect was observed on p-doped graphene since the envelope membrane is essential to maintain the entire architecture, the effects on lipids have been evaluated by the same group using dipalmitoylphosphatidylcholine (DPPC) bilayer in molecular dynamics simulations. Graphene-based materials without difficulty pierce the capsid and translocate through it thanks to the ion channels charged groups [69].

Moving to experimental results with graphene derivatives, GO nanosheets are able to inactivate SARS-CoV-2 using a two-step mechanism, (i) the adsorption of the positively charged spike of SARS-CoV-2 on the negatively charged GO surface and (ii) then the neutralization/ inactivation through decomposition of the viral protein. In this sense, the GO, thanks to the oxygen groups on the surface, has proven to be more effective than its reduced counterpart rGO [70].

GO has affinity towards the spike protein, ACE2 receptors and spikeACE2 complex. However, GO interferes more sharply with the viral spike and the ACE2 before binding to the virus ligand. Based on this in silico examination, when cells were exposed to GO prior to viral treatment, pronounced viral inhibition was observed compared to a postinfection protocol in vitro [71]. Similarly, De Maio et al. demonstrated a trapping mechanism of GO flakes that remove viral particles in solution [53] (Fig. 7 from Ref. [53]).

GO modifications also interfere with viral envelope: different lengths of alkyl chain have been attached to GO to determine the inhibition of feline coronavirus and SARS-CoV-2 and an alkyl chain greater than C9 can disturb coronavirus replication by destabilizing its envelope [72].

Theoretical studies have demonstrated that fullerenes are potential inhibitors of SARS-CoV-2 thanks to the number of interactions established with the spike protein and the ACE2. Fullerene C48 represents the most efficient nanomaterial per se due to the flattened shape which confers a larger inhibitory surface. The adsorption of oxygen on fullerene increases the noncovalent contacts and creates increased hydrogen bonds which stabilize the various complexes while decreasing the binding energies [73].

A comprehensive study on the five major targets of SARS-CoV-2 (S protein, RNA directed RNA polymerase, Main protease, Papain-like protease, RNA binding domain of Nucleocapsid protein) and fullerene or carbon nanotubes has been conducted by Skaryacian and colleagues using molecular docking [74].

Carbon nano fullerene (C60) has an important molecular specificity for all tested targets interacting with four aminoacidic residues present at the recognition domain of Spike glycoprotein. An RNA polymerase C60 docking model displays interactivity along the helix and beta-strand regions.

By analysing the conformation and orientation of Carbon nanotubes into possible SARS-CoV-2 binding sites several putative associations have been proposed: 11 residues of the Spike glycoprotein, essential for structural integrity, interact with the carbonaceous material, while the material binds eight residues of the binding site of RNA-dependent RNA polymerase. Five residues close to the Lopinavir and Ritonavir recognition domains in the main protease show better binding energy with possible development of drug. Three out of the ten interacting residues of papain-like protease have a largely reported interplay with nelfinavir and remdesivir conventional drugs. In another theoretical study, it has been demonstrated that SWCNTs might interact with the RBD, reducing the intra-hydrogen bonding, and increasing the water-exposed region by altering tertiary structure [75].

Patel and colleagues have tested the main protease of SARS-CoV-2 and the spike RBD complexed with its receptor ACE2 binding to MWCNTs of different morphologies (zigzag, armchair and chiral). The


Fig. 7. The trapping mechanisms of GO in solution allow to precipitate SARS-CoV-2 particles (A). With the addition of low concentration of GO, VERO cell monolayer integrity is restored, as is visible from optical microscopy (B), fluorescence microscopy (C) and crystal violet staining (D). Data on retrieved fluorescence, cell viability and lactate dehydrogenase (LDH) confirm that infectivity is inhibited by GO trapping (E-F-G, respectively). Reproduced with permission from Ref. [53]. (A colour version of this figure can be viewed online.)
data indicate that MWCNTs interact with the active sites of the main protease along with ACE2 receptors. The highest free binding energy was observed for the armchair with SARS-CoV-2 for both hollow and bamboo-shaped MWCNT for the SARS-CoV-2 spike RBD-based ACE2 receptor [76].

Interaction of CBM with other viruses have been recently discussed in comprehensive reviews $[6,7]$.

There is currently a lack of studies concerning nanoonions, nanocones or nanodiamonds interactions with SARS spike protein to our knowledge. However, nanodiamonds have been conjugated with antibodies for diagnostic purposes, as discussed below [77].

### 4.2. Physical sterilization and viral damage by reactive oxygen species

Physical methods (irradiation, X-rays, and Photodynamic therapy (PDT)) can directly damage viral components, mainly nucleic acids, as shown in Fig. 8 from Ref. [78] or generate ROS that can destabilize viral components [9].

De Maio et al. demonstrated sun-mediated viral inactivation on graphene 3D-printed medical devices [79], also Huanget al. have shown that laser-induced graphene under low solar irradiation has high virucidal efficacy against coronaviruses [80]. Similarly, graphene films in nonwoven fibers of face masks can inactivate SARS-CoV-2 under sun irradiation [81] and masks can be reused after light treatment [82].

Lastly, photodynamic therapy is a recent methodology for the inactivation of native microbes. The PDT effect occurs when a photosensitizer and $\mathrm{O}_{2}$ are exposed to light; hence, PDT represents a local treatment limited to specific infection sites. Once exposed to visible light, photosensitizer compounds react with $\mathrm{O}_{2}$ to produce ROS. The genetic material of the viruses can be disrupted by PDT as photosensitizers may bind or intercalate with viral nucleic acids. Viral proteins naturally endure structural adaptations, such as protein cross-linking. CBM represent excellent photosensitizers for PDT, together with recent materials MXenes [83-86]. The easy optical transition between the loosely held p bands of CBM carbon bond mainly contributes to the absorption of light [87]. Fullerene C60 and functionalized GO have been


Fig. 8. Physical methods to combat viruses. Reproduced with permission from Ref. [78]. (A colour version of this figure can be viewed online.)
used for antiviral PDT [86,88]. Beside viral inactivation PDT can be used to modulate immune response [89-91]. However, ROS formation may also damage many cellular organelles and processes, ultimately interrupting the normal physiology of cells.

Thus, moving the cellular redox homeostasis, by means of drugs to a more reduced status could encourage viral proliferation. On the contrary, higher oxidizing levels could suppress the viral replication but increase the host damage [54]. Indeed SARS-COV-2 is also a stress inducer in vivo and the combination of oxidative stress and release of pro-inflammatory cytokines contributes to damage of tissues observed in the pathogenesis of COVID-19 patients [92].

## 5. CBM vaccines and immunotherapies

Vaccines continue to be the most effective strategy to defend the population against viral infections, since they induce the production of distinct antibodies [93].

The process of designing a vaccine involves the discovery of an antigen, an adjuvant that amplifies the immune response elicited by the antigen, and an appropriate delivery mechanism [4]. Nanomaterials used for vaccine delivery are developed to augment the uptake by antigen-presenting cells (APCs), and/or achieve controlled or sustained release of the antigen for optimal presentation [94].

Nanocarriers can protect antigens from proteolytic degradation and allow a sustainable release profile. Nanodelivery platforms serve as a long-lasting depot of antigen to boost the immune system, and facilitate

APC uptake. Antigens that have large surface areas are more effective at interacting with APCs owing to their diverse surface properties, such as charge, hydrophobicity, and ability to interact with receptors. Conversely, small protein antigens are poorly internalized and presented by APCs.

In addition, nanocarrier surface modification with ligands or antibodies targeting pattern recognition receptors can enhance antigen delivery to specific APCs through active targeting. Finally, nanocarriers allow co-delivery of immunostimulatory components along with antigens to achieve a synergistic effect [95].

In addition to the delivery uses, nanomaterials have an intrinsic immunomodulatory activity that makes them potentially applicable as adjuvants [95]. Their nanoscale size influences Inflammasome and complement activation, and immune cell recruitment [96].

The utilization of nanomaterials as vaccine adjuvants has been increasingly explored for immune protection and immunotherapy against infectious diseases and malignant cancers. Nanomaterials enable dose-sparing (using less antigen or requiring fewer immunizations), create a wide-ranging antibody response against pathogens that undergo antigenic drift or variation, and offer quick and long-lasting protection. Adjuvants can be classified as either immunomodulatory molecules, non-immunostimulatory delivery systems (for enhanced antigen presentation), or a combination of both, depending on their function and application. Only a small proportion of candidates, such as alum (aluminum salts), squalene-in-water emulsions, virosomes, and AS04 (monophosphoryl lipid A preparation plus alum), have been licensed or utilized in clinical trials.

The primary methods of immunization for human vaccines consist of the oral, nasal, intramuscular, intradermal, intraperitoneal, and intravenous administration. The size and surface properties of nanoparticles are the predominating factors controlling their behaviours in biological barrier transport, tissue and cellular uptake and the induction of immune responses [95].

During intranasal or aerosolized immunization to boost mucosal and lung immunity, the deposition and distribution of nanoparticles in the respiratory tract is governed by diffusion due to displacement when they collide with air molecules. Nanoparticles of $10-100 \mathrm{~nm}$ are mostly deposited in the alveolar region; and nanoparticles of $1-10 \mathrm{~nm}$ in diameter in the tracheobronchial region. Once deposited, nanoparticles appear to transfer to extrapulmonary sites and target different organs readily. In contrast, large particles are rarely transferred and are instead cleared by mucociliary movement or phagocytes [95]. This should be taken into account considering the different distribution in the respiratory tract of the variant Omicron. Upon intradermal injection, nanoparticles are more efficient at overcoming biological barriers than microparticles, this is true in general for all biological barriers but there isn't a consensus on a specific size [95,97]. Intravenous nano-adjuvants or nanoparticles that bypass organ barriers at the site of administration will enter the circulation. It has been suggested that the mechanism of hepatic uptake is mediated by the protein corona, that induces alterations in blood circulating time.

The induction of an adaptive immune response requires the transportation of antigens to secondary lymphoid organs, such as lymph nodes and spleen, and the size of the antigen is a crucial factor in this process. Particles ranging from 20 to 200 nm can effectively penetrate the initial lymphatic vessels, where the junctions between endothelial cells that line the vessels are permeable. However, the lymphatic capillaries that are closer to the lymph node have a more restrictive structure, permitting only particles smaller than about $\sim 5 \mathrm{~nm}$ to pass through specialized narrow channels directly into the lymph node. Particles measuring between 200 and 500 nm cannot passively enter the lymphatic vessels but require the aid of dendritic cells (DCs) to be transported into the lymphatic system. As antigens with dimensions of $20-200 \mathrm{~nm}$ may freely drain to the lymphatic capillaries, designing vaccines within this size range is imperative for the facilitation of direct interaction with B cells in the secondary lymphoid organs, and thus
activation of a potent immune response.
Antigen retention by DCs is also affected by nanoparticle size while particle shape does not appear to play a significant role in localization to and activation of B-cells, though certain shapes are preferentially taken up over others by cells of the peripheral immune system [96].

Beside in vivo distribution, data on immune interactions of carbonaceous material are contrasting [98]. A significant effort to systematize the data on CBM immunomics has been done recently by the G-IMMUNOMICS and CARBO-IMmap projects [99]. Data have been recently summarized on a review from Azelvedo and colleagues [12], whose scheme is reported in Fig. 9.

CBM may activate the immunological system useful for immunotherapy that engages the immune system to kill tumor cells or vaccine design [32].

Here we list some interesting data concerning using CBM in immune control for vaccination; in many studies the adjuvant effect has been demonstrated using Ovalbumin (OVA) as an antigen.

Ultrasmall GO-supported gold nanoparticles (usGO-Au) have been proposed as immune adjuvant and can efficiently stimulate RAW264.7 cells to secrete tumor necrosis factor- $\alpha$. In vivo, usGO-Au@OVA can also promote robust OVA specific antibody response, $\mathrm{CD8}^{+} \mathrm{T}$ cells proliferation, and different cytokines secretion, therefore, inducing potent humoral and cellular immune responses [100].

Modulating the formation of DC-T-cell synapses may greatly increase efficacy of DC vaccines, used for cancer and infectious diseases. The GO has size dependent effect on DCs and on the creation of synapsed between DC and T-cells: GOs with diameters $>1 \mu \mathrm{~m}$ (L-GO) demonstrate strong adherence to the DC surface, inducing cytoskeletal reorganization while relatively small GOs ( $\approx 500 \mathrm{~nm}$ ) are predominantly internalized by DCs. Furthermore, L-GO enhances DC-T-cell synapse formation. L-GO acts as a "nanozipper," facilitating the aggregation of DC-T-cell clusters to produce a stable microenvironment for T cell activation. Importantly, L-GO-adjuvanted DCs promote robust cytotoxic T cell immune responses against $S$ of SARS-CoV-2, leading to $>99.7 \%$ viral RNA clearance in infected mice infected [101].

A novel Hepatitis E virus (HEV) vaccine was created utilizing chitosan-modified nano-GO (GO-CS) as an adjuvant to support HEV antigen P239 protein (GO/CS/P239): GO/CS/P239 vaccine can promote immune cells to produce more IgG antibodies and cytokines, which were able to stimulate the organism to produce stronger cellular and humoral immunity [102].

Polyethyleneimine-functionalized GO nanoparticles showed high antigen-loading capacities and superior immunoenhancing properties after adsorption of influenza hemagglutinin (HA). These formulations induced significantly enhanced and cross-reactive immune responses at both systemic sites and mucosal surfaces in mice after intranasal immunization [103].

Carnosine GO adjuvant loaded with CpG molecule and RBD protein antigen-induced the production of high titre anti-SARS-CoV-2 RBD antibody neutralizing SARS-CoV-2 in mice within 2 weeks [104].

A DNA vaccine together with a hydrophobic immune adjuvant (R848) was delivered using Thiolated low-molecular-weight polyethylenimine (TPEI1.8) crosslinked with 4-aminothiophenol-modified GO (TGO). This system significantly enhanced the DNA transfection, the expression of the costimulatory signal, and the level of antigen presentation to MHC class I DCs for their activation and maturation [105].

Chitosan (CS)-functionalized GO (GO-CS) nanoadjuvant significantly activates RAW264.7 cells and stimulates cytokines secretion [106].

To avoid possible GO-mediated oxidative stress and inflammatory reaction at the site of injection, Carnosine (Car) was used as antioxidant to decorate ultrasmall GO flakes. OVA@GO-Car generates strong and long OVA-specific antibody response, increase lymphocyte proliferation efficiency, and enhance $\mathrm{CD} 4^{+} \mathrm{T}$ and $\mathrm{CD} 8^{+} \mathrm{T}$ cell activation. The presence of Car in GO also probably contributes to enhance the antigenspecific adaptive immune response through modulating the expression
Carbon Nanomaterials (CNM): Carbon Nanotubes, Graphene Derivatives, Fullerenes, Nanodiamonds

| Immunosuppression |
| :---: |
| Autoimmune, auto-inflammatory <br> and allergic disorders |



Fig. 9. A summary of immunosuppressive and immunostimulative properties of carbon Reproduced with permission from Ref. [12]. (A colour version of this figure can be viewed online.)
of cytokines. After modification with carnosine, histological damages in lung, muscle, kidney, and spleen became significantly weaken [107].

GO was used as adjuvant for immunotherapy using urease B (Ure B), a specific antigen for Helicobacter pilori, as the model antigen. Polyethylene glycol (PEG) and polyethylenimine (PEI) were used to create GO-PEG-PEI that worked as a positive modulator of DCs maturation and enhanced their cytokine secretion through the activation of multiple toll-like receptor pathways. Moreover, this GO-PEG-PEI was an effective antigen carrier to effectively shuttle antigens into DCs. Compared with free Ure B and clinically used aluminum-adjuvant-based vaccine (AlumUre B), GO-PEG-PEI-Ure B induces stronger cellular immunity after intradermal administration [108].

Lentinan (LNT), a $\beta$-1,3-glucohexaose with $\beta-1,6$-branches that is extracted from the mushroom Lentinus edodes, can bind to various immune receptors [109].

GO grafted with LNT facilitates antigen uptake in macrophages and improved the efficiency of antigen application in vitro. GO-LNT/OVA sustained a long-term immune responses and boosted the levels of IgG thanks to increased amounts of antigen uptake by cells [110]. Similarly LNT-MWCNTs rapidly entered dendritic cells and carry large amounts of antigen with upregulation of DCs maturation markers [109].

Beside GO, a series of studies are available also for CNT as adjuvants [111]. CS-MWCNT encapsulating Hericium erinaceus polysaccharide (HEP), an immunostimulant promoted the expression of MHCII, CD86,

F4/80 and gp38 in mice peritoneal macrophages. Moreover, CS-MWCNT-HEP immunized mice significantly lengthened IgG immune response and cytokines levels [112].

Phospholipid-PEGylated single-walled carbon nanotubes (PL-PEGSWCNTs) were applied as a safe co-adjuvant for the commercial recombinant hepatitis B virus vaccine to enhance induction of monocytederived dendritic cells differentiation and activation in vitro as an immune response initiator cell to prompt a long-term immune response after a single dose injection [113].

B cells incubated with acid-functionalized single-walled carbon nanotubes (OVA-AF-SWCNT) internalized more OVA than the B cells incubated with free OVA with a higher antibody response was highest in the group where ovalbumin coupled to AF-SWCNTs was used for immunization comparable Freund's adjuvant [114].

Cytosine-phosphorothioate-guanine oligodeoxynucleotides (CpG ODN) are immunotherapeutic agents and vaccine adjuvants. SWCNT functionalized with PEI and alkylcarboxylated PEI (AL-PEI) have been tested as delivery systems for CpG ODN. The results showed that all nano-adjuvant formulations had a strong influence in the up-regulation of IFN- $\gamma$ and IL-4 in parallel with high IgG1-IgG2a isotype antibody titres in mice. In particular, SWCNT-AL-PEI nano-adjuvant formulation generated a balanced Th1/Th2 immune response with more biased toward Th1 response without exhibiting any inflammatory and toxic effects [115].

To enhance the stability and immunogenicity of the protective antigen (PA) of Bacillus anthracis, MWCNTs have been proposed as a nanocarriers. After the second booster, anti-rPAD4 IgG level in MWCNTs-rPAD4 groups was significantly higher compared to group immunized with Freund's adjuvant [116].

Multihydroxylated fullerene has been proven as an efficient adjuvant for human immunodeficiency virus DNA vaccine and HCV: a relatively low dose was sufficient to promote both humoral and cellular immune responses to antigens and reduce the usage of antigen [117].

ND-based adjuvants have been proposed as a rapid and versatile platform for antigen conjugation, utilizing peptides common to different pathogenic strains and making this strategy a good candidate for a "ready-to-use" vaccine. Initiation of an inflammatory reaction with a resulting immune response is based on the ability of living organisms to entrap nanostructures such as ND with neutrophil extracellular traps (NETs) formation. Coronavirus peptide homological for MERS-CoV, fusion inhibitor, was conjugated to nanodiamonds and used to induce neutrophilic driven self-limiting inflammation. The resulting adjuvant was safe and did not induce damage at the site of injection. Animal immunization displayed an elevated grade of antibodies [118].

The feasibility of utilizing ND to deliver $\mathrm{NH}_{2}$-PLGA nanoparticleencapsulated fig polysaccharides (FP) for strongly enhanced immune responses showed that NDs-PLGA-FP/OVA could promote antigen uptake and lymphocyte proliferation, increase the expression levels of MHC II, CD80 and CD86, and upregulate the ratio of Th1/Th2 cells in immunized mice. NDs-PLGA-FP/OVA could also upregulate the IL-17 signaling pathway for further immunological enhancement. NDs-PLGA-FP/OVA induced increased TNF- $\alpha$, IFN- $\gamma$, IL-4, and IL- 6 cytokine secretion and the levels of OVA-IgG antibodies [119].

Quaternized cationic carbon dots derived from biquaternary ammonium salt (BQAS-CDs) bound to the negatively charged OVA to form BQAS-CDs-OVA nanocomplexes dramatically enhance the uptake of antigen by APCs. The BQAS-CDs-OVA nanocomplexes significantly increase the anti-OVA IgG2a and IgG2b levels and keep a significant level of the OVA-specific IgG1 antibody, inducing both robust Th1- and Th2-type immune responses and stimulating the proliferation of OVAspecific CD4 ${ }^{+}$and $\mathrm{CD} 8^{+} \mathrm{T}$ cells [120].

Besides the cell interaction control, the development of adjuvants necessitates a comprehensive understanding of the specific virus's infection and immune activation mechanism [4].

SARS-CoV-2 infection's pathophysiology can lead to an aggressive inflammatory response and might cause an extended activation of the immune response leading to hypercytokinemia and polyorgan dysfunction syndrome (as summarized in Fig. 10 from Ref. [121]).

Nanomaterials may therefore be applied to control the immune system as (i) boosters/adjuvants or (ii) as cytokine storm [4] inhibitors. Indeed MWCNT and fullerenes present a direct influence on immunomodulation, especially fullerenes C60 which has a proven capacity to scavenge free oxygen radicals in their cage structure, reducing ROS generation. This effect can lower the release of inflammatory and/or allergic mediators [12]. Similarly, carbon dots can act as ROS scavengers, preventing related oxidative damage and pro-inflammatory response [12].

## 6. High technology readiness level applications of CBM for SARS CoV-2 pandemics

Beside the use as adjuvants, which requires approval for in vivo administration and further elucidation of systemic effects and accumulation, diagnostic devices and high-touch surfaces based on CBM have a higher technical readiness level. In this section, we discuss the proposed applications of the last years.

### 6.1. Carbon nanobiosensors for SARS-CoV-2 detection

A comprehensive and updated review concerning molecular biology
and antigen test available and approved from FDA has been recently written by Tali and colleagues [15]. Although highly sensitive in detecting SARS-CoV-2 infection, RT-PCR techniques are complex and require time to produce the diagnostic result. Rapid antigen tests are also used, but they sometimes are inaccurate. To address these challenges, there is a growing need for more efficient and economical diagnostic tools. Biosensors have proven to be a viable solution for detecting the virus, and with the advancements in artificial intelligence and Internet of things, compact diagnostic assay have been designed possessing a great degree of reactivity, precision, and rapidity, along with a very small threshold of recognition [123]. As a consequence of these innovations, also led to the ideation of on-body transportable devices for quick virus detection and recognition by continuous monitoring of individual medical conditions.

CBM are extremely versatile with broad sensing properties. In terms of electrical conductivity, while fullerene C60 is insulating, SWNT exhibit long mean free paths (microns) for electron transport, and semiconductor SWNTs and MWNTs show features of diffusive transport. Finally graphene has the best electrical conductivity in plane [124-126].

The specific surface area and consequently the capacitance, broadly varies along CBM family: CNTs depending on the number of walls and the diameter have surface area values from 50 to $1315 \mathrm{~m}^{2} \mathrm{~g}^{-1}$. While graphene, considering both sides, has a predicted specific surface area of 2630 of $\mathrm{m}^{2} \mathrm{~g}^{-1}$ [127]. The specific surface area influences also the quantity of ligands (S protein, nucleic acids, ACE2, S antibodies) available for reaction.

While further research is necessary, the improvement of compact systems like fluorometric, and conductometric SARS-CoV-2 detectors based on CBM is underway, as is visible from the applications listed in Table 2.

### 6.2. Protective equipment and environmental control of SARS-CoV-2 spreading

Antimicrobial substances and coverings have diverse applications, such as preventing enteric viruses on food packaging and surfaces that come into contact with food, and preserving personal health with products and PPE. (Fig. 11 from Ref. [122]).

A recent Review reported the most viral contaminated surfaces in hospital settings, which include tray tables, monitors, bed rails, computer keyboards, computer mouse, toilet bowl rims and toilet seats [152].

The specific properties required vary depending on the application; for example, materials used in food production must be non-toxic, while those used in public transportation must be stable, durable, and nonflammable. Despite having the ability to specifically interact with SARS-CoV-2 components (see Chapter 3), to the best of our knowledge, studies on disinfectant addition with CBM are still lacking, probably for the uncertainty of hazardous effects and the cost compared to alcoholic solutions. Conversely approved nanomaterial-based disinfectants contain silver and/or copper nanoparticles formulations and titanium and silver zeolite nanomaterials [153]. Concerning large surfaces such as walls and floors, data on graphene nanoparticles and CNT antifouling properties as paint components might be used for the analysis of performance against viruses [154].

Table 3 recapitulates the practical applications of CBM materials and coatings that limited SARS-CoV-2 infectivity. So far, all SARS-CoV-2 PPE studies have been focused on graphene, likely because it is less expensive compared to other CBM and can be deposited on large surfaces. Also, applications demonstrating efficacy are all focused on face masks, though it is likely that any fabrics can be used to create other PPE devices such as lab coats. We highlight that other applications that showed promising results on other microbes are not included in the table, but can be found in recent broad Reviews [122,155,156].

Several companies including Bonbouton, Zen Graphene Solutions Ltd., Directa Plus PLC "Guardian G-Volt", Planar TECH \& IDEATI,


Fig. 10. When SARS-CoV-2 invades cells that express the ACE2 and TMPRSS2 proteins, the virus replicates inside the cells and releases new viral particles, causing the cells to undergo pyroptosis and release damage-associated molecules such as ATP, nucleic acids, and ASC oligomers. These molecules are then detected by neighboring cells, which trigger the release of pro-inflammatory cytokines and chemokines. The presence of these molecules attracts immune cells such as monocytes, macrophages, and T cells to the site of infection, which promotes inflammation. In a dysfunctional immune response, this process can lead to the accumulation of immune cells in the lungs, resulting in an overproduction of cytokines and significant tissue damage. This can cause a cytokine storm and multi-organ failure. Neutralizing immunoglobulins block viral infection, and alveolar macrophages recognize neutralized viruses and apoptotic cells, clearing them through phagocytosis. Cytokines such as G-CSF (granulocyte colony-stimulating factor) and TNF (tumor necrosis factor) play an essential role in this process. Overall, the interplay between the virus, the immune system, and various cellular responses is complex and critical to understanding the pathogenesis of COVID-19. Reproduced with permission from Ref. [121]. (A colour version of this figure can be viewed online.)


Fig. 11. Hospital surfaces and nanotechnological solution studied. Reproduced with permission under the terms of the Creative Commons CC BY license, from Ref. [122]. (A colour version of this figure can be viewed online.)

Redcliffe Medical Devices Inc., together with Universities such as Israel and Indian Institute of technology, are now commercially producing graphene-based face masks [155]. The use of self-cleaning properties of graphene via sunlight mediated process or electrochemical sterilization [161] might both serve as a low-cost and environmentally friendly solution for face mask and air filter recycling [79-82]. Also, laser induced graphene scribing process might reduce possible leakage of nanomaterials in the wearer and/or the environment [162].

The monitoring and tracking of viral spread can be also obtained by environmental sensors: in 2018, a textile screen-printed biosensor based on a GO transduction film was developed for the detection of influenza A virus H1N1. The sensor was integrated with fabric and was aimed to track the virus before disease manifests [163].

Carbon nanotubes and graphene are among the most promising materials for the adsorption of a wide range of environmental organic and inorganic pollutants. In fact, these nanomaterials have shown better capabilities than other more commonly used sorbents such as active carbon, clays, and zeolites as they can establish stronger physical and chemical interactions with pollutants, allowing for rapid adsorption. Furthermore, the possibility of chemically modifying the surface allows controlling the selectivity of the material for certain species rather than others. During the adsorption process of organic molecules different forms of interactions can occur simultaneously such as hydrophobic interactions, $\pi-\pi$ hydrogen bonding interactions and electrostatic interactions.

The graphitic structure present on the surface of carbon nanotubes and graphene due to poor polarity has a strong affinity with hydrocarbons (such as hexane, benzene, cyclohexane) rather than with polar molecules. Through the functionalization of the nanomaterial, on the other hand, there is usually a tendency to introduce groups containing oxygen on its surface, thus decreasing the useful surface for the adsorption of non-polar substances in favor of polar species. This strategy has been used for example to control the adsorption and for the removal from industrial waste of dyes, heavy metals, phenols of synthetic origin such as bisphenol A, endocrine disruptors, pesticides, and antibiotics of phenols on the surface of nanotubes and graphene [164]. CBM-based membrane filters have a higher surface area, oxygen groups, and have improved corrosion resistance than standard adsorbents and for these reasons are extremely promising for wastewater treatment [165].

The colloidal stability of GO and the multifunctionalities of oxygen groups on its surface are responsible for a mechanism of trapping small compounds and salts, nucleic acids [166], protein [167], viruses [53]
and even large bacteria [168], that can be exploited for the decontamination of waters.

The trapping effect of SARS-CoV-2 has been demonstrated for bare GO [53,71], however functionalization of GO has been also proposed for the same application. As an example, reduced GO nanoparticles functionalized with iron and cetyltrimethylammonium bromide have been synthesized to absorb SARS-CoV-2 and other viruses from the environment [169].

High-performance air filters have been made using nano-fibers as well as metals, and CBM, as reviewed recently by Mallakpour et al. [5]. However, there are few filters made by CBM tested for viruses and specifically for SARS-CoV-2. Laser-induced graphene filter can capture contaminants and microorganisms and have self-cleaning properties by Joule-heating reaching $>300{ }^{\circ} \mathrm{C}$ [162]. VirusWall is a commercial medical device that filters air through a laser-induced graphene membrane launched in the market in 2021 (https://ieeexplore.ieee.org/do cument/9359386). Propylene filters coated with graphene can inhibit bacteria and SARS-CoV-2 passage and be integrated in 3D-printed face masks [160].

It has been reported that air filter paper with a high filtration efficiency made of wood fiber filter paper covered by MWCNTs can remove small-size pollutant particles [170]. Also CNT-made electrically conductive filters can be actively self-sanitized by thermal flashes via resistive heating to temperatures $>80^{\circ} \mathrm{C}$ that entirely deactivate betacoronavirus and adenoviruses [171].

## 7. Market aspects

The potential market of CBM products for pandemics could be significant with opportunities in the production of PPE such as masks, gloves, and protective suits, as well as in the production of diagnostic and decontamination devices.

In evaluating the impact of CBM on the global economy, it is necessary not only to think about the absolute number of devices sold but also about the best performance and efficiency of nanomaterials such as graphene, fullerene, or nanotubes and the environmental impact of these materials [172].

WHO has estimated that 3.4 billion masks end up in the trash every day (global data), together with 140 million test kits, which have the potential to generate 2600 tons of non-infectious waste (mainly plastic) and $731,000 \mathrm{~L}$ of chemical waste [173]. A recent study appeared in Environmental Advances revealed that a large part of the masks ends up in water (almost 5500 metric tons of plastic every year with an

Table 2
Summary of CBM materials applied for SARS-CoV-2 detection.

| CBM | Conjugated molecule (probe) | Detection technology | Ref |
| :---: | :---: | :---: | :---: |
| Au-decorated-graphene | Phosphorodiamidate morpholino oligos that recognize RdRp gene | Field-effect transistor | [128] |
| GO decorated Au /fiber Bragg grating | S glycoprotein | Surface plasmon resonance | [129] |
| Graphene nanoplatelets on filter paper | thiol-modified ssDNAcapped nano-Au particles for selective targeting of the nucleocapsid phosphoprotein | Electrochemical biosensor | [130] |
| GO/Au-based composite electrode | - | Screen-printed electrodes | [131] |
| Graphene electrodes patterned on a polyimide substrate | SARS-CoV-2 S1 protein and specific antibodies for the detection of Nucleocapsid protein (NP), specific immunoglobulins against SARS-CoV-2 spike protein (S1-IgM and S1-IgG) | Electrochemical biosensor | [132] |
| rGO on 3D nanoprinted electrodes | S protein | Electrochemical biosensorsmartphone | [133] |
| Graphene | Anti SARS-CoV-2 antibodies | Field-effect transistor | [134] |
| Cy5-labeled (GT)6 ssDNA SWCNT | ACE2 | Fluorescence | [135] |
| GO | Anti SARS-CoV-2 antibodies | Interdigitated capacitive biosensing | [136] |
| Graphene/CNT | Peptides binding RBD of the Spike protein | - | [137] |
| (PEG)-phospholipid heteropolymers adsorbed onto nearinfrared (NIR) fluorescent SWCNTs | - | NIR Fluorescence | [138] |
| rGO Au nanoparticles and nano-islands | ACE2 | Fluorescence | [139] |
| Fluorescent ND | Anti-SARS-CoV-2 antibodies | Spin-Enhanced <br> Lateral Flow <br> Immunoassay | [77] |
| Laser-scribed graphene <br> (LSG) sensor coupled with gold nanoparticles | ACE2 | Smartphone electrosensor | [140] |
| Graphene | Anti-Spike antibody/ ACE2/ACE2-Fc | Field-effect transistor | [141] |
| n-printed carbon electrode modified with electrodeposited Graphene Quantum Dots and polyhydroxybutyric acid | RBD | Electrosensor | [142] |
| Dual-color carbon dot | Antisense oligonucleotides for SARS-CoV-2 RNA | Aggregation in solution and fluorescence emission | [143] |
| Carbon quantum dots | $S$ protein | Aggregation in solution and fluorescence emission | [144] |
| Single-walled carbon nanotube | anti-SARS-CoV-2 spike protein antibody (SAb) and anti-nucleocapsid protein antibody for $S$ and N antigen respectively | Field-effect transistor | [145] |
| CNTs/WO3-screen printed electrodes | Virus imprinted chips | Impedimetric biosensor | [146] |

Table 2 (continued)

| CBM | Conjugated molecule (probe) | Detection technology | Ref |
| :---: | :---: | :---: | :---: |
| MWCNTs screenprinted electrode | methylene blue (MB), antibodies against SARSCoV-2 spike protein (SP), a bioactive layer of chitosan (CS) and protein A (PrA). | Voltametric and Impedimetric biosensor | [147] |
| Polyethylene terephthalate film functionalized with SWCNT | Anti-spike antibodies | Immunoresistive biosensor | [148] |
| SWCNT screen-printed electrodes | Redox-tagged DNA aptamer binding the RBD domain | Electrochemical sensor | [149] |
| gold nanoparticles ( GNp ) and thionine (Th) are immobilized on carboxylic acid functionalized SWCNT | Anti-spike antibodies | Electrochemical sensor | [150] |
| SWCNT Single-stranded | SARS-CoV-2 nucleic acids | Bandgap nearinfrared photoluminescence | [151] |

Table 3
Application of CBM materials on medical surfaces and PPE against SARS-CoV-2.

| CBM Material | Application (surface/PPE) | Ref. |
| :--- | :--- | :--- |
| Coal derived octadecylamine- <br> functionalized nano-GO | Polyethyleneterephthalate fabric | $[157]$ |
| Graphene/Graphene Curcumin <br> Graphene-PLA <br> Graphene/Graphene Oxide | Cotton/Polyester Fabrics | $[158]$ |
| Graphene nanosheet-embedded | 3D-printed respiratory valve | $[79]$ |
| carbon film | polton and non-woven | $[53]$ |
| Functionalized graphene | Propylene filter for face masks | $[160]$ |

optimistic downward estimate), also highlighting how a single mask could release up to 173,000 plastic microfibers per day into the oceans, with possible damage from obstruction following ingestion by aquatic animals, and toxicological effects due to the conveyance of chemical contaminants. and organic [174]. The presence of sub-micrometric plastic, capable of crossing biological barriers, is also worrying. The impact of the enormous number of polluting materials due to the pandemic has therefore made the protection of the environment and water one of the major concerns of society and with an enormous socio-economic impact [175].

The global water treatment market is experiencing strong growth, driven by the growing needs of agriculture but also by new sectors such as seawater desalination and water treatment waste [176]. As for the global market, in the year 2021 reached a value of 164.24 billion dollars and is estimated to be worth 211 billion dollars in 2025.

Also in this market, CBM can be a game changer in the control and purification of water and the environment which are strongly compromised by the exponential increase in the use of devices for the pandemic that do not yet envisage the use of a circular economy.

Given the continual growth of medical care demand for graphene, by 2027 the related business is expected to encounter a $39 \%$ yearly progression and reach a volume of almost 3 M of dollars [155]. Interestingly Galante and colleagues point out that a twenty times less expensive production of graphene can be obtained from coal rather than graphite [157].

## 8. Perspectives and challenges

Material scientists have learned much in the last three years of pandemics. On one side, nanomaterial technologies have improved observing viruses [177], mimicking viral strategies used to hijack cells or evade immune responses. Indeed, several distinct viral traits such as size and surface, multivalent ligands, glycosylation, charge, stimuli responsiveness ( pH , ROS and enzymatic triggers), and the sequential interactions with cellular receptors might help creating nanomaterials with better pharmacokinetics and delivery advantages [178].

Materials science has also created thousands of new solutions to quickly respond to pandemic diseases by creating devices that detect viral proteins, point-of-care diagnosis and monitoring methods, and treatment and vaccination strategies [172].

Given the risk for new zoonoses and/or spreading of drug-resistant species and the rapid mutation of viral variants with diffusion in the community, a multidisciplinary approach designed by both nanomaterial scientists and biotechnologists is necessary. Among nanomaterials, CBM have been synthesized in a variety of shape, sizes and functionalized and tested in many different biological systems in the last 15-20 years.

On one hand, the CBM high surface area, the possibility of functionalization, and the high sensitivity in diagnostics will serve as a starting block for innovations for new pathogens. On the other hand, the biotechnological synthesis of peptides recognizing the latest variant or small RNAs replicating viral genome must be combined with CBM platforms to ensure specificity against new pathogens [137].

As an example, synthetic neutralizing peptides have been screened for the inhibition of SARS-CoV-2 interaction with cells, have a smaller molecular weight and are more economical to produce compared with antibodies [179]. These peptides might be easily combined with CBM diagnostic platforms already existing. In Fig. 12, a possible workflow for new sensors development, used for experimental procedures by Badhe et al. [137], is shown.

Similarly, given the synergistic effect demonstrated by CBM and
drugs [180,181], it would be interesting to evaluate the combined effects of CBM with broad-spectrum antiviral compounds such as rhodamine and thiobarbituric derivatives [182].

CBM might also be useful for the treatment of secondary bacterial and fungal infections that are responsible for the death of many COVID19 patients [172,183,184].

Importantly, since the distribution of nanomaterials in vivo strictly depends on their size, the treatment can be designed to target higher or lower respiratory tract according to viral tropism during intranasal or aerosolized immunization to boost mucosal and lung immunity [95]. This should be considered given the different distribution in the respiratory tract of the new variant Omicron [185].

Modern artificial intelligence techniques might also offer new compounds for treatment by analyzing the available data on COVID-19 [186] or by predicting new epitopes or evolution of viral species [187].

In this sense, five possible scenarios have been described recently [188].

The first possibility, less probable, is the lack of any further evolution of the SARS-CoV-2 S-protein. A second possibility is based on possible point Mutations, Insertions/Deletions, and/or Intra-SARS-CoV-2 recombination creation of new variants. As long as the virus continues to circulate in the environment, the risk of the appearance of variants is latent.

The third possibility is represented by the occurrence of intratypic recombination between SARS-CoV-2 and other Sarbecoviruses. This scenario requires zoonotic transmission and a co-infection that allows the recombination between the two viruses. Forth possibility: intertypic recombination between SARS-CoV-2 and viruses from other beta-CoV subgenus. A structural protein region from SARS-CoV-2 passes to an animal or human CoV of another Beta-CoVs subgenus. Due to the adaptation, the protein undergoes rapid divergence, and the recombined virus is different to parental. The possibility 3 and 4 occurred for influenza A H1N1/pdm2009 where there was co-infection (with H1N1 classical swine + H1N1 avian + H3N2 seasonal human + H1N1 Eurasian swine viruses) that recombined and generated a new virus. Therefore,


Fig. 12. The protocol of peptide design and testing creation of CBM sensors. Reprinted with permission from Ref. [179]. Copyright 2021 American Chemical Society. (A colour version of this figure can be viewed online.)
this eventuality requires at least two viruses be circulating at the same time and also infect a host at the same time (co-infection).

Possibility 5: Accessory open reading frame acquisition by nonhomologous recombination of SARS-CoV-2 with other coronaviruses or even other viruses/hosts or even via de novo gene birth. These evolutionary processes have already been observed in beta-genus CoVs and as a result, the molecular biology of the recombinant virus changed.

As already stressed out, virtually all the advances made in the CBM field, not only the last 3 years' efforts, will serve as a response to any pandemic of the future, no matter whether a sensor has been developed for a nonviral protein as long as the recognizing probe is specific and changeable.

It is noteworthy to underlight the fundamental role of scientists in elucidating the immune and more in general the blood kinetics of the CBM nanomaterials for the creation of new treatments and vaccines. Both for immunostimulation necessary for vaccination or immune suppression of COVID-19 generated cytokine storm.

Finally, engineered sensors coupled with smartphone devices will offer the availability to leverage pharmacy and hospital overcrowding allowing a point-of-care low-cost diagnosis.

A global multidisciplinary network focused on the communication of advancements in nanomaterial field, biotechnology and immunology can achieve coordinated detection, protection, containment, and therapy in the future.

## Declaration of competing interest

The authors declare that they have no known competing financial interests or personal relationships that could have appeared to influence the work reported in this paper.

## Data availability

No data was used for the research described in the article.

## Acknowledgments

V.P. acknowledges for funding "One Health Basic and Translational Research Actions addressing Unmet Needs on Emerging Infectious Diseases - INFACT" - PNRR NextGenerationEU" Project, M.P. acknowledges funding from FLAGERA JTC2019 MARGO Project. This work was supported by the Università Cattolica del Sacro Cuore [Linea D1 and Linea D3.2]. Università Cattolica del Sacro Cuore contributed to the funding of this research project and its publication.

## References

[1] W.-Y. Chi, Y.-D. Li, H.-C. Huang, T.E.H. Chan, S.-Y. Chow, J.-H. Su, L. Ferrall, C.F. Hung, T.-C. Wu, COVID-19 vaccine update: vaccine effectiveness, SARS-CoV-2 variants, boosters, adverse effects, and immune correlates of protection, J. Biomed. Sci. 29 (2022) 1-27.
[2] B.J. Willett, J. Grove, O.A. MacLean, C. Wilkie, G. De Lorenzo, W. Furnon, D. Cantoni, S. Scott, N. Logan, S. Ashraf, SARS-CoV-2 Omicron is an immune escape variant with an altered cell entry pathway, Nat. Microbiol. 7 (2022) 1161-1179.
[3] P. Singh, D. Singh, P. Sa, P. Mohapatra, A. Khuntia, S. K Sahoo, Insights from nanotechnology in COVID-19: prevention, detection, therapy and immunomodulation, Nanomedicine 16 (2021) 1219-1235.
[4] Z. Tang, N. Kong, X. Zhang, Y. Liu, P. Hu, S. Mou, P. Liljeström, J. Shi, W. Tan, J. S. Kim, A materials-science perspective on tackling COVID-19, Nat. Rev. Mater. 5 (2020) 847-860.
[5] S. Mallakpour, E. Azadi, C.M. Hussain, Fabrication of air filters with advanced filtration performance for removal of viral aerosols and control the spread of COVID-19, Adv. Colloid Interface Sci. (2022), 102653.
[6] Á. Serrano-Aroca, K. Takayama, A. Tuñón-Molina, M. Seyran, S.S. Hassan, P. Pal Choudhury, V.N. Uversky, K. Lundstrom, P. Adadi, G. Palù, Carbon-based nanomaterials: promising antiviral agents to combat COVID-19 in the microbialresistant era, ACS Nano 15 (2021) 8069-8086.
[7] J. Yu, C. Kuwentrai, J.-D. Huang, C. Xu, Carbon-based nanomaterials for viral infection management, Biomicrofluidics 15 (2021), 11501.
[8] V. Palmieri, M. Papi, C. Conti, G. Ciasca, G. Maulucci, M. De Spirito, The future development of bacteria fighting medical devices: the role of graphene oxide, Expet Rev. Med. Dev. 13 (2016) 1013-1019.
[9] V. Palmieri, M. Carmela Lauriola, G. Ciasca, C. Conti, M. De Spirito, M. Papi, The graphene oxide contradictory effects against human pathogens, Nanotechnology 28 (2017).
[10] R.L. Pinals, D. Yang, D.J. Rosenberg, T. Chaudhary, A.R. Crothers, A.T. Iavarone, M. Hammel, M.P. Landry, Quantitative protein corona composition and dynamics on carbon nanotubes in biological environments, Angew. Chem. Int. Ed. 59 (2020) 23668-23677.
[11] V. Palmieri, G. Perini, M. De Spirito, M. Papi, Graphene oxide touches blood: in vivo interactions of bio-coronated 2D materials, Nanoscale Horiz. 4 (2018) 273-290.
[12] S. Azevedo, R. Costa-Almeida, S.G. Santos, F.D. Magalhães, A.M. Pinto, Advances in carbon nanomaterials for immunotherapy, Appl. Mater. Today 27 (2022), 101397.
[13] V. Palmieri, M. Papi, Can graphene take part in the fight against COVID-19? Nano Today (2020), 100883.
[14] V. Palmieri, F. De Maio, M. De Spirito, M. Papi, Face masks and nanotechnology: keep the blue side up, Nano Today 37 (2021), 101077.
[15] S.H. Safiabadi Tali, J.J. LeBlanc, Z. Sadiq, O.D. Oyewunmi, C. Camargo, B. Nikpour, N. Armanfard, S.M. Sagan, S. Jahanshahi-Anbuhi, Tools and techniques for severe Acute respiratory syndrome coronavirus 2 (SARS-CoV-2)/ COVID-19 detection, Clin. Microbiol. Rev. 34 (2021) e00228-20.
[16] Z. Adamczyk, P. Batys, J. Barbasz, SARS-CoV-2 virion physicochemical characteristics pertinent to abiotic substrate attachment, Curr. Opin. Colloid Interface Sci. 55 (2021), 101466.
[17] N. Zhu, D. Zhang, W. Wang, X. Li, B. Yang, J. Song, X. Zhao, B. Huang, W. Shi, R. Lu, A novel coronavirus from patients with pneumonia in China, N. Engl. J. Med. 2020 (2019).
[18] B.J. Fraser, S. Beldar, A. Seitova, A. Hutchinson, D. Mannar, Y. Li, D. Kwon, R. Tan, R.P. Wilson, K. Leopold, Structure and activity of human TMPRSS2 protease implicated in SARS-CoV-2 activation, Nat. Chem. Biol. (2022) 1-9.
[19] E. Trucchi, P. Gratton, F. Mafessoni, S. Motta, F. Cicconardi, F. Mancia, G. Bertorelle, I. D'Annessa, D. Di Marino, Population dynamics and structural effects at short and long range support the hypothesis of the selective advantage of the G614 SARS-CoV-2 spike variant, Mol. Biol. Evol. 38 (2021) 1966-1979.
[20] D. Kwon, OMICRON'S structure could help explain its global takeover, Nature 602 (2022) 373.
[21] T.P. Peacock, J.C. Brown, J. Zhou, N. Thakur, K. Sukhova, J. Newman, R. Kugathasan, A.W.C. Yan, W. Furnon, G. De Lorenzo, The altered entry pathway and antigenic distance of the SARS-CoV-2 Omicron variant map to separate domains of spike protein, bioRxiv (2022) 2012-2021.
[22] E.C. Thomson, B.J. Willett, Omicron: a shift in the biology of SARS-CoV-2, Nat. Microbiol. 7 (2022) 1114-1115.
[23] D. Bojkova, M. Widera, S. Ciesek, M.N. Wass, M. Michaelis, J. Cinatl, Reduced interferon antagonism but similar drug sensitivity in Omicron variant compared to delta variant of SARS-CoV-2 isolates, Cell Res. 32 (2022) 319-321.
[24] V. Palmieri, M. Papi, C. Conti, G. Ciasca, G. Maulucci, M. De Spirito, The future development of bacteria fighting medical devices: the role of graphene oxide, Expet Rev. Med. Dev. 13 (2016) 1013-1019.
[25] D. Acharya, K.M. Singha, P. Pandey, B. Mohanta, J. Rajkumari, L.P. Singha, Shape dependent physical mutilation and lethal effects of silver nanoparticles on bacteria, Sci. Rep. 8 (2018) 1-11.
[26] T. Zhou, Y. Tsybovsky, A.S. Olia, J. Gorman, M.A. Rapp, G. Cerutti, P. S. Katsamba, A. Nazzari, A. Schön, P. Wang, A pH-dependent switch mediates conformational masking of SARS-CoV-2 spike, bioRxiv (2020), 31 Jul 2020, :2020.07.04.187989.
[27] O. Areo, P.U. Joshi, M. Obrenovich, M. Tayahi, C.L. Heldt, Single-particle characterization of SARS-CoV-2 isoelectric point and comparison to variants of interest, Microorganisms 9 (2021) 1606.
[28] E. Joonaki, A. Hassanpouryouzband, C.L. Heldt, O. Areo, Surface chemistry can unlock drivers of surface stability of SARS-CoV-2 in a variety of environmental conditions, Chem 6 (2020) 2135-2146.
[29] E. Piktel, Ł. Suprewicz, J. Depciuch, S. Chmielewska, K. Skłodowski, T. Daniluk, G. Król, P. Kołat-Brodecka, P. Bijak, A. Pajor-Świerzy, Varied-shaped gold nanoparticles with nanogram killing efficiency as potential antimicrobial surface coatings for the medical devices, Sci. Rep. 11 (2021) 1-20.
[30] C. Kinnear, T.L. Moore, L. Rodriguez-Lorenzo, B. Rothen-Rutishauser, A. PetriFink, Form follows function: nanoparticle shape and its implications for nanomedicine, Chem. Rev. 117 (2017) 11476-11521.
[31] C. Auría-Soro, T. Nesma, P. Juanes-Velasco, A. Landeira-Viñuela, H. FidalgoGomez, V. Acebes-Fernandez, R. Gongora, M.J. Almendral Parra, R. ManzanoRoman, M. Fuentes, Interactions of nanoparticles and biosystems: microenvironment of nanoparticles and biomolecules in nanomedicine, Nanomaterials 9 (2019) 1365.
[32] G.H. Da Silva, L.S. Franqui, R. Petry, M.T. Maia, L.C. Fonseca, A. Fazzio, O. L. Alves, D.S.T. Martinez, Recent advances in immunosafety and nanoinformatics of two-dimensional materials applied to nano-imaging, Front. Immunol. 12 (2021), 689519.
[33] M. Papi, M.C. Lauriola, V. Palmieri, G. Ciasca, G. Maulucci, M. De Spirito, Plasma protein corona reduces the haemolytic activity of graphene oxide nano and micro flakes, RSC Adv. 5 (2015) 81638-81641.
[34] P.C. Henriques, A.T. Pereira, A.L. Pires, A.M. Pereira, F.D. Magalhães, I. C. Gonçalves, Graphene surfaces interaction with proteins, bacteria, mammalian
cells, and blood constituents: the impact of graphene platelet oxidation and thickness, ACS Appl. Mater. Interfaces 12 (2020) 21020-21035.
[35] C. Salvador-Morales, E. Flahaut, E. Sim, J. Sloan, M.L.H. Green, R.B. Sim, Complement activation and protein adsorption by carbon nanotubes, Mol. Immunol. 43 (2006) 193-201.
[36] L. Wu, F. Fu, W. Wang, W. Wang, Z. Huang, Y. Huang, X. Pan, C. Wu, Plasma protein corona forming upon fullerene nanocomplex: impact on both counterparts, Particuology 73 (2023) 26-36.
[37] D. Khanal, Q. Lei, G. Pinget, D.A. Cheong, A. Gautam, R. Yusoff, B. Su, S. Yamaguchi, A. Kondyurin, J.C. Knowles, The protein corona determines the cytotoxicity of nanodiamonds: implications of corona formation and its remodelling on nanodiamond applications in biomedical imaging and drug delivery, Nanoscale Adv. 2 (2020) 4798-4812.
[38] G. Hong, S. Diao, A.L. Antaris, H. Dai, Carbon nanomaterials for biological imaging and nanomedicinal therapy, Chem. Rev. 115 (2015) 10816-10906.
[39] N. Anzar, R. Hasan, M. Tyagi, N. Yadav, J. Narang, Carbon nanotube-A review on synthesis, properties and plethora of applications in the field of biomedical science, Sensors Int. 1 (2020), 100003.
[40] S.Y. Madani, A. Mandel, A.M. Seifalian, A concise review of carbon nanotube's toxicology, Nano Rev. 4 (2013), 21521.
[41] N. Chandrasekar, R. Balaji, R.S. Perala, N.Z. Nik Humaidi, K. Shanmugam, Y.C. Liao, M.T. Hwang, S. Govindaraju, A brief review of graphene-based biosensors developed for rapid detection of COVID-19 biomarkers, Biosensors 13 (2023) 307.
[42] K. Gorshkov, K. Susumu, J. Chen, M. Xu, M. Pradhan, W. Zhu, X. Hu, J.C. Breger, M. Wolak, E. Oh, Quantum dot-conjugated SARS-CoV-2 spike pseudo-virions enable tracking of angiotensin converting enzyme 2 binding and endocytosis, ACS Nano 14 (2020) 12234-12247.
[43] B.N. Tran, E. Oh, K. Susumu, M. Wolak, K. Gorshkov, High-throughput confocal imaging of quantum dot-conjugated SARS-CoV-2 spike trimers to track binding and endocytosis in HEK293T cells, JoVE (Journal Vis. Exp. 182 (2022), e63202.
[44] Y.M. Manawi, A. Samara, T. Al-Ansari, M.A. Atieh, A review of carbon nanomaterials' synthesis via the chemical vapor deposition (CVD) method, Materials 11 (2018) 822.
[45] B.-T. Zhang, X. Zheng, H.-F. Li, J.-M. Lin, Application of carbon-based nanomaterials in sample preparation: a review, Anal. Chim. Acta 784 (2013) 1-17.
[46] M. Zeiger, N. Jäckel, V.N. Mochalin, V. Presser, Carbon onions for electrochemical energy storage, J. Mater. Chem. 4 (2016) 3172-3196.
[47] J.I. Castro, M.N. Chaur, C.H.V. Llano, M.E. Valencia Zapata, J.H. Mina Hernandez, C.D. Grande-Tovar, Biocompatibility study of electrospun nanocomposite membranes based on chitosan/polyvinyl alcohol/oxidized carbon nano-onions, Molecules 26 (2021) 4753.
[48] R. Majumder, T. Pal, A. Basumallick, C. Das Mukhopadhyay, Functionalized carbon nano onion as a novel drug delivery system for brain targeting, J. Drug Deliv. Sci. Technol. 63 (2021), 102414.
[49] A. Kausar, Nanocone-versatile nanofiller for cutting-edge polymeric nanocomposite, Polym. Technol. Mater. 61 (2022) 989-1002.
[50] N. Padmavathy, R. Vijayaraghavan, Enhanced bioactivity of ZnO nanoparticles-an antimicrobial study, Sci. Technol. Adv. Mater. 9 (2008) 3.
[51] O. Akhavan, E. Ghaderi, Toxicity of graphene and graphene oxide nanowalls against bacteria, ACS Nano 4 (2010) 5731-5736.
[52] M. Kumari, S. Pandey, V.P. Giri, A. Bhattacharya, R. Shukla, A. Mishra, C. S. Nautiyal, Tailoring shape and size of biogenic silver nanoparticles to enhance antimicrobial efficacy against MDR bacteria, Microb. Pathog. 105 (2017) 346-355.
[53] F. De Maio, V. Palmieri, G. Babini, A. Augello, I. Palucci, G. Perini, A. Salustri, P. Spilman, M. De Spirito, M. Sanguinetti, Graphene nanoplatelet and graphene oxide functionalization of face mask materials inhibits infectivity of trapped SARS-CoV-2, iScience 24 (2021), 102788.
[54] R. Nadhan, D. Patra, N. Krishnan, A. Rajan, S. Gopala, D. Ravi, P. Srinivas, Perspectives on mechanistic implications of ROS inducers for targeting viral infections, Eur. J. Pharmacol. 890 (2021), 173621.
[55] V. Palmieri, G. Perini, M. De Spirito, M. Papi, Graphene oxide touches blood:: in vivo interactions of bio-coronated 2D materials, Nanoscale Horiz. 4 (2019) 464-471.
[56] W.C. Lee, C.H.Y.X. Lim, H. Shi, L.A.L. Tang, Y. Wang, C.T. Lim, K.P. Loh, Origin of enhanced stem cell growth and differentiation on graphene and graphene oxide, ACS Nano 5 (2011) 7334-7341.
[57] Z.-S. Yan, X.-L. Li, Y.-Q. Ma, H.-M. Ding, Effect of the graphene nanosheet on functions of the spike protein in open and closed states: comparison between SARS-CoV-2 wild type and the Omicron variant, Langmuir 38 (2022) 13972-13982.
[58] D.J. Benton, A.G. Wrobel, P. Xu, C. Roustan, S.R. Martin, P.B. Rosenthal, J. J. Skehel, S.J. Gamblin, Receptor binding and priming of the spike protein of SARS-CoV-2 for membrane fusion, Nature 588 (2020) 327-330.
[59] P. Garg, S. Sangam, D. Kochhar, S. Pahari, C. Kar, M. Mukherjee, Exploring the role of triazole functionalized heteroatom Co-doped carbon quantum dots against human coronaviruses, Nano Today 35 (2020), 101001.
[60] A. Pramanik, P.C. Sharma, S. Patibandla, Y. Gao, V. Ruppa-Kasani, J. Goli, A. Kumar, A. Chatterjee, S.S. Sinha, J.T. Bates, Blocking SARS-CoV-2 delta variant (B. 1.617. 2) spike protein receptor-binding domain binding with the ACE2 receptor of the host cell and inhibiting virus infections using human host defense peptide-conjugated graphene quantum dots, ACS Omega 7 (2022) 8150-8157.
[61] A. Łoczechin, K. Séron, A. Barras, E. Giovanelli, S. Belouzard, Y.-T. Chen, N. Metzler-Nolte, R. Boukherroub, J. Dubuisson, S. Szunerits, Functional carbon
quantum dots as medical countermeasures to human coronavirus, ACS Appl. Mater. Interfaces 11 (2019) 42964-42974.
[62] J. Du, C. Yang, X. Ma, Q. Li, Insights into the conformation changes of SARS-CoV2 spike receptor-binding domain on graphene, Appl. Surf. Sci. (2021), 151934.
[63] Z. Benková, M. Cordeiro, Structural behavior of monomer of SARS-CoV-2 spike protein during initial stage of adsorption on graphene, Mater. Today Chem. 22 (2021), 100572.
[64] B. Raval, A.K. Srivastav, S.K. Gupta, U. Kumar, S.K. Mahapatra, P.N. Gajjar, I. Banerjee, Synthesis of exfoliated multilayer graphene and its putative interactions with SARS-CoV-2 virus investigated through computational studies, J. Biomol. Struct. Dyn. 40 (2022) 712-721.
[65] M. Papi, V. Palmieri, F. Bugli, M. De Spirito, M. Sanguinetti, C. Ciancico, M. C. Braidotti, S. Gentilini, L. Angelani, C. Conti, Biomimetic antimicrobial cloak by graphene-oxide agar hydrogel, Sci. Rep. 6 (2016).
[66] V. Palmieri, M. Barba, L. Di Pietro, S. Gentilini, M.C. Braidotti, C. Ciancico, F. Bugli, G. Ciasca, R. Larciprete, W. Lattanzi, Reduction and shaping of graphene-oxide by laser-printing for controlled bone tissue regeneration and bacterial killing, 2D Mater. 5 (2017), 15027.
[67] X. Lu, X. Feng, J.R. Werber, C. Chu, I. Zucker, J.-H. Kim, C.O. Osuji, M. Elimelech, Enhanced antibacterial activity through the controlled alignment of graphene oxide nanosheets, Proc. Natl. Acad. Sci. USA 114 (2017) E9793-E9801.
[68] A. Al-Jumaili, M.A. Zafar, K. Bazaka, J. Weerasinghe, M.V. Jacob, Bactericidal vertically aligned graphene networks derived from renewable precursor, Carbon Trends 7 (2022), 100157.
[69] M. Khedri, R. Maleki, M. Dahri, M.M. Sadeghi, S. Rezvantalab, H.A. Santos, M.A. Shahbazi, Engineering of 2D nanomaterials to trap and kill SARS-CoV-2: a new insight from multi-microsecond atomistic simulations, Drug Deliv. Transl. Res. 12 (2022) 1408-1422.
[70] M. Fukuda, M.S. Islam, R. Shimizu, H. Nasser, N.N. Rabin, Y. Takahashi, Y. Sekine, L.F. Lindoy, T. Fukuda, T. Ikeda, Lethal interactions of SARS-CoV-2 with graphene oxide: implications for COVID-19 treatment, ACS Appl. Nano Mater. 4 (2021) 11881-11887.
[71] M.A. Unal, F. Bayrakdar, H. Nazir, O. Besbinar, C. Gurcan, N. Lozano, L. M. Arellano, S. Yalcin, O. Panatli, D. Celik, Graphene oxide nanosheets interact and interfere with SARS-CoV-2 surface proteins and cell receptors to inhibit infectivity, Small 17 (2021), 2101483.
[72] I.S. Donskyi, C. Nie, K. Ludwig, J. Trimpert, R. Ahmed, E. Quaas, K. Achazi, J. Radnik, M. Adeli, R. Haag, Graphene sheets with defined dual functionalities for the strong SARS-CoV-2 interactions, Small 17 (2021), 2007091.
[73] M. Brahimi, D. Sellam, A. Bouchoucha, Y. Arbia, H. Merazka, R. Bagtache, K. Djebbari, K. Bachari, O. Talhi, In-silico modelling of fullerene and fullerene adsorbed by nO2 molecules ( $\mathrm{N}(\mathrm{O} 2) @ \mathrm{Cm}$ with $\mathrm{N}=1,2,4$ and $\mathrm{M}=48$ and 60 ) as potential SARS-CoV-2 inhibitors, Bull. Mater. Sci. 44 (2021) 1-11.
[74] S. Skariyachan, D. Gopal, D. Deshpande, A. Joshi, A. Uttarkar, V. Niranjan, Carbon fullerene and nanotube are probable binders to multiple targets of SARS-CoV-2: insights from computational modeling and molecular dynamic simulation studies, Infect. Genet. Evol. 96 (2021), 105155.
[75] M. Jomhori, H. Mosaddeghi, H. Farzin, Tracking the interaction between singlewall carbon nanotube and SARS-cov-2 spike glycoprotein: a molecular dynamics simulations study, Comput. Biol. Med. 136 (2021), 104692.
[76] S. Patel, A.K. Srivastav, S.K. Gupta, U. Kumar, S.K. Mahapatra, P.N. Gajjar, I. Banerjee, Carbon nanotubes for rapid capturing of SARS-COV-2 virus: revealing a mechanistic aspect of binding based on computational studies, RSC Adv. 11 (2021) 5785-5800.
[77] W.W.-W. Hsiao, N. Sharma, T.-N. Le, Y.-Y. Cheng, C.-C. Lee, D.-T. Vo, Y.Y. Hui, H.-C. Chang, W.-H. Chiang, Fluorescent nanodiamond-based spin-enhanced lateral flow immunoassay for detection of SARS-CoV-2 nucleocapsid protein and spike protein from different variants, Anal. Chim. Acta 1230 (2022), 340389.
[78] N. Kaushik, S. Mitra, E.J. Baek, L.N. Nguyen, P. Bhartiya, J.H. Kim, E.H. Choi, N. K. Kaushik, The inactivation and destruction of viruses by reactive oxygen species generated through physical and cold atmospheric plasma techniques: current status and perspectives, J. Adv. Res. 43 (January 2023) 59-71.
[79] F. De Maio, E. Rosa, G. Perini, A. Augello, B. Niccolini, F. Ciaiola, G. Santarelli, F. Sciandra, M. Bozzi, M. Sanguinetti, 3D-Printed graphene polylactic acid devices resistant to SARS-CoV-2: sunlight-mediated sterilization of additive manufactured objects, Carbon N. Y. 194 (2022) 34-41.
[80] L. Huang, M. Gu, Z. Wang, T.W. Tang, Z. Zhu, Y. Yuan, D. Wang, C. Shen, B. Z. Tang, R. Ye, Highly efficient and rapid inactivation of coronavirus on nonmetal hydrophobic laser-induced graphene in mild conditions, Adv. Funct. Mater. 31 (2021), 2101195.
[81] Z. Lin, Z. Wang, X. Zhang, D. Diao, Superhydrophobic, photo-sterilize, and reusable mask based on graphene nanosheet-embedded carbon (GNEC) film, Nano Res. (2020) 1-14.
[82] H. Zhong, Z. Zhu, J. Lin, C.F. Cheung, V.L. Lu, F. Yan, C.-Y. Chan, G. Li, Reusable and recyclable graphene masks with outstanding superhydrophobic and photothermal performances, ACS Nano 14 (2020) 6213-6221.
[83] C. Weiss, M. Carriere, L. Fusco, I. Capua, J.A. Regla-Nava, M. Pasquali, J.A. Scott, F. Vitale, M.A. Unal, C. Mattevi, Toward nanotechnology-enabled approaches against the COVID-19 pandemic, ACS Nano 14 (6) (2020) 6383-6406.
[84] A. Rosenkranz, G. Perini, J.Y. Aguilar-Hurtado, D.F. Zambrano, B. Wang, B. Niccolini, P. Henriques, E. Rosa, F. De Maio, G. Delogu, Laser-mediated antibacterial effects of few-and multi-layer Ti3C2Tx MXenes, Appl. Surf. Sci. (2021), 150795.
[85] D. Lu, R. Tao, Z. Wang, Carbon-based materials for photodynamic therapy: a mini-review, Front. Chem. Sci. Eng. 13 (2019) 310-323.
[86] K. Khorsandi, S. Fekrazad, F. Vahdatinia, A. Farmany, R. Fekrazad, Nano antiviral photodynamic therapy: a probable biophysicochemical management modality in SARS-CoV-2, Expet Opin. Drug Deliv. 18 (2021) 265-272.
[87] J.S. Lee, J. Kim, Y. Ye, T. Kim, Materials and device design for advanced phototherapy systems, Adv. Drug Deliv. Rev. (2022), 114339.
[88] S.K. Sharma, L.Y. Chiang, M.R. Hamblin, Photodynamic therapy with fullerenes in vivo: reality or a dream? Nanomedicine 6 (2011) 1813-1825.
[89] A.P. Castano, P. Mroz, M.R. Hamblin, Photodynamic therapy and anti-tumour immunity, Nat. Rev. Cancer 6 (2006) 535-545.
[90] D. Yang, S. Lei, K. Pan, T. Chen, J. Lin, G. Ni, J. Liu, X. Zeng, Q. Chen, H. Dan, Application of photodynamic therapy in immune-related diseases, Photodiagnosis Photodyn. Ther. 34 (2021), 102318.
[91] V. Palmieri, F. Sciandra, M. Bozzi, M. De Spirito, M. Papi, 3D graphene scaffolds for skeletal muscle regeneration: future perspectives, Front. Bioeng. Biotechnol. 8 (2020).
[92] G.E. Forcados, A. Muhammad, O.O. Oladipo, S. Makama, C.A. Meseko, Metabolic implications of oxidative stress and inflammatory process in SARS-CoV-2 pathogenesis: therapeutic potential of natural antioxidants, Front. Cell. Infect. Microbiol. 11 (2021), 654813.
[93] Z.-R. Yang, Y.-W. Jiang, F.-X. Li, D. Liu, T.-F. Lin, Z.-Y. Zhao, C. Wei, Q.-Y. Jin, X.M. Li, Y.-X. Jia, Efficacy of SARS-CoV-2 vaccines and the dose-response relationship with three major antibodies: a systematic review and meta-analysis of randomised controlled trials, The Lancet Microbe 4 (4) (2023) E236-E246.
[94] M. Papi, D. Pozzi, V. Palmieri, G. Caracciolo, Principles for optimization and validation of mRNA lipid nanoparticle vaccines against COVID-19 using 3D bioprinting, Nano Today (2022), 101403.
[95] M. Zhu, R. Wang, G. Nie, Applications of nanomaterials as vaccine adjuvants, Hum. Vaccines Immunother. 10 (2014) 2761-2774.
[96] S.M. Curley, D. Putnam, Biological nanoparticles in vaccine development, Front. Bioeng. Biotechnol. (2022) 443.
[97] V. Palmieri, G. Caracciolo, Tuning the immune system by nanoparticlebiomolecular corona, Nanoscale Adv. (16) (2022).
[98] X. Yuan, X. Zhang, L. Sun, Y. Wei, X. Wei, Cellular toxicity and immunological effects of carbon-based nanomaterials, Part. Fibre Toxicol. 16 (2019) 1-27.
[99] A. Gazzi, L. Fusco, M. Orecchioni, S. Ferrari, G. Franzoni, J.S. Yan, M. Rieckher, G. Peng, M.A. Lucherelli, I.A. Vacchi, Graphene, other carbon nanomaterials and the immune system: toward nanoimmunity-by-design, J. Phys. Mater. 3 (2020), 34009.
[100] Y. Cao, Y. Ma, M. Zhang, H. Wang, X. Tu, H. Shen, J. Dai, H. Guo, Z. Zhang, Ultrasmall graphene oxide supported gold nanoparticles as adjuvants improve humoral and cellular immunity in mice, Adv. Funct. Mater. 24 (2014) 6963-6971.
[101] Q. Zhou, H. Gu, S. Sun, Y. Zhang, Y. Hou, C. Li, Y. Zhao, P. Ma, L. Lv, S. Aji, Largesized graphene oxide nanosheets increase DC-T-cell synaptic contact and the efficacy of DC vaccines against SARS-CoV-2, Adv. Mater. 33 (2021), 2102528.
[102] Q. Bai, Z. Wang, A.N. Yina, J. Tian, Z. Li, Y. Yang, Y. Dong, M. Chen, T. Liu, Chitosan-functionalized graphene oxide as adjuvant in HEV P239 vaccine, Vaccine 40 (2022) 7613-7621.
[103] C. Dong, Y. Wang, G.X. Gonzalez, Y. Ma, Y. Song, S. Wang, S.-M. Kang, R. W. Compans, B.-Z. Wang, Intranasal vaccination with influenza HA/GO-PEI nanoparticles provides immune protection against homo-and heterologous strains, Proc. Natl. Acad. Sci. USA 118 (2021), e2024998118.
[104] A. Gao, H. Liang, Q. Shen, C. Zhou, X.M. Chen, J. Tian, D. Cui, Designing a novel nano-vaccine against SARS-CoV-2, Nano Biomed. Eng. 12 (2020) 321-324.
[105] Y. Yin, T.L. Nguyen, B. Wang, H.T.T. Duong, D.S. Lee, J.-H. Kim, J. Kim, J. H. Jeong, Simultaneous delivery of DNA vaccine and hydrophobic adjuvant using reducible polyethylenimine-functionalized graphene oxide for activation of dendritic cells, J. Ind. Eng. Chem. 80 (2019) 870-876.
[106] T. Yan, H. Zhang, D. Huang, S. Feng, M. Fujita, X.-D. Gao, Chitosan-functionalized graphene oxide as a potential immunoadjuvant, Nanomaterials 7 (2017) 59.
[107] C. Meng, X. Zhi, C. Li, C. Li, Z. Chen, X. Qiu, C. Ding, L. Ma, H. Lu, D. Chen, Graphene oxides decorated with carnosine as an adjuvant to modulate innate immune and improve adaptive immunity in vivo, ACS Nano 10 (2016) 2203-2213.
[108] L. Xu, J. Xiang, Y. Liu, J. Xu, Y. Luo, L. Feng, Z. Liu, R. Peng, Functionalized graphene oxide serves as a novel vaccine nano-adjuvant for robust stimulation of cellular immunity, Nanoscale 8 (2016) 3785-3795.
[109] J. Xing, Z. Liu, Y. Huang, T. Qin, R. Bo, S. Zheng, L. Luo, Y. Huang, Y. Niu, D. Wang, Lentinan-modified carbon nanotubes as an antigen delivery system modulate immune response in vitro and in vivo, ACS Appl. Mater. Interfaces 8 (2016) 19276-19283.
[110] Z. Liu, J. He, T. Zhu, C. Hu, R. Bo, A. Wusiman, Y. Hu, D. Wang, Lentinanfunctionalized graphene oxide is an effective antigen delivery system that modulates innate immunity and improves adaptive immunity, ACS Appl. Mater. Interfaces 12 (2020) 39014-39023.
[111] E.N. de Carvalho Lima, R.S. Diaz, J.F. Justo, J.R.C. Piqueira, Advances and perspectives in the use of carbon nanotubes in vaccine development, Int. J. Nanomed. 16 (2021) 5411.
[112] Z. Ren, Y. Luo, Z. Meng, J. Zhang, R. Yu, M. Sun, T. Xu, J. Li, Y. Ma, Y. Huang, Multi-walled carbon nanotube polysaccharide modified Hericium Erinaceus polysaccharide as an adjuvant to extend immune responses, Int. J. Biol. Macromol. 182 (2021) 574-582.
[113] N. Hadidi, Z. Sharifnia, A. Eteghadi, M.A. Shokrgozar, N. Mosaffa, PEGylated single-walled carbon nanotubes as Co-adjuvants enhance expression of maturation markers in monocyte-derived dendritic cells, Nanomedicine 16 (2020) 171-188.
[114] T.S. Dutt, R.K. Saxena, Enhanced antibody response to ovalbumin coupled to poly-dispersed acid functionalized single walled carbon nanotubes, Immunol. Lett. 217 (2020) 77-83.
[115] M. Ebrahimian, M. Hashemi, M. Maleki, K. Abnous, G. Hashemitabar, M. Ramezani, A. Haghparast, Induction of a balanced Th1/Th2 immune responses by Co-delivery of PLGA/ovalbumin nanospheres and CpG ODNs/PEI-SWCNT nanoparticles as TLR9 agonist in BALB/c mice, Int. J. Pharm. 515 (2016) 708-720.
[116] F. Karimi, S. Alizadeh, H. Alizadeh, Immunogenicity of multi-walled carbon nanotubes functionalized with recombinant protective antigen domain 4 toward development of a nanovaccine against anthrax, J. Drug Deliv. Sci. Technol. 47 (2018) 322-329.
[117] J. Liu, X. Feng, Z. Chen, X. Yang, Z. Shen, M. Guo, F. Deng, Y. Liu, H. Zhang, C. Chen, The adjuvant effect of $\mathrm{C} 60(\mathrm{OH}) 22$ nanoparticles promoting both humoral and cellular immune responses to HCV recombinant proteins, Mater. Sci. Eng. C 97 (2019) 753-759.
[118] R. Bilyy, Q. Pagneux, N. François, G. Bila, R. Grytsko, Y. Lebedin, A. Barras, J. Dubuisson, S. Belouzard, K. Séron, Rapid generation of coronaviral immunity using recombinant peptide modified nanodiamonds, Pathogens 10 (2021) 861.
[119] Z. Zhang, D. Li, X. Ma, X. Li, Z. Guo, Y. Liu, S. Zheng, Carboxylated nanodiamondmediated NH2-PLGA nanoparticle-encapsulated fig polysaccharides for strongly enhanced immune responses in vitro and in vivo, Int. J. Biol. Macromol. 165 (2020) 1331-1345.
[120] S. Huang, B. Li, U. Ashraf, Q. Li, X. Lu, X. Gao, M. Cui, M. Imran, J. Ye, F. Cao, Quaternized cationic carbon dots as antigen delivery systems for improving humoral and cellular immune responses, ACS Appl. Nano Mater. 3 (2020) 9449-9461.
[121] M.Z. Tay, C.M. Poh, L. Rénia, P.A. MacAry, L.F.P. Ng, The trinity of COVID-19: immunity, inflammation and intervention, Nat. Rev. Immunol. 20 (2020) 363-374.
[122] P.D. Rakowska, M. Tiddia, N. Faruqui, C. Bankier, Y. Pei, A.J. Pollard, J. Zhang, I. S. Gilmore, Antiviral surfaces and coatings and their mechanisms of action, Commun. Mater. 2 (2021) 53.
[123] G. Ciasca, L. Businaro, M. Papi, A. Notargiacomo, M. Chiarpotto, A. De Ninno, V. Palmieri, S. Carta, E. Giovine, A. Gerardino, A. Gerardino, M. De Spirito, Selfassembling of large ordered DNA arrays using superhydrophobic patterned surfaces, Nanotechnology 24 (2013).
[124] P. Delhaes, Carbon-Based Solids and Materials, John Wiley \& Sons, 2013.
[125] Y.M. Omar, C. Maragliano, C.-Y. Lai, F. Lo Iacono, N. Bologna, M.V. Diamanti, T. Shah, A. Al Ghaferi, M. Chiesa, Multi-wall carbon nanostructured paper: characterization and potential applications definition, Mater. Res. Express 2 (2015), 95601.
[126] A. Bachtold, M.S. Fuhrer, S. Plyasunov, M. Forero, E.H. Anderson, A. Zettl, P. L. McEuen, Scanned probe microscopy of electronic transport in carbon nanotubes, Phys. Rev. Lett. 84 (2000) 6082.
[127] A. Peigney, C. Laurent, E. Flahaut, R.R. Bacsa, A. Rousset, Specific surface area of carbon nanotubes and bundles of carbon nanotubes, Carbon N. Y. 39 (2001) 507-514.
[128] J. Li, D. Wu, Y. Yu, T. Li, K. Li, M.-M. Xiao, Y. Li, Z.-Y. Zhang, G.-J. Zhang, Rapid and unamplified identification of COVID-19 with morpholino-modified graphene field-effect transistor nanosensor, Biosens. Bioelectron. 183 (2021), 113206.
[129] A. Samavati, Z. Samavati, M. Velashjerdi, A.F. Ismail, M.H.D. Othman, M. S. Abdullah, M. Bolurian, M. Bolurian, Sustainable and fast saliva-based COVID19 virus diagnosis kit using a novel GO-decorated Au/FBG sensor, Chem. Eng. J. 420 (2021), 127655.
[130] M. Alafeef, K. Dighe, P. Moitra, D. Pan, Rapid, ultrasensitive, and quantitative detection of SARS-CoV-2 using antisense oligonucleotides directed electrochemical biosensor chip, ACS Nano 14 (2020) 17028-17045.
[131] S.A. Hashemi, N.G.G. Behbahan, S. Bahrani, S.M. Mousavi, A. Gholami, S. Ramakrishna, M. Firoozsani, M. Moghadami, K.B. Lankarani, N. Omidifar, Ultra-sensitive viral glycoprotein detection NanoSystem toward accurate tracing SARS-CoV-2 in biological/non-biological media, Biosens. Bioelectron. 171 (2021), 112731.
[132] R.M. Torrente-Rodríguez, H. Lukas, J. Tu, J. Min, Y. Yang, C. Xu, H.B. Rossiter, W. Gao, SARS-CoV-2 RapidPlex: a graphene-based multiplexed telemedicine platform for rapid and low-cost COVID-19 diagnosis and monitoring, Matter 3 (2020) 1981-1998.
[133] M.A. Ali, C. Hu, S. Jahan, B. Yuan, M.S. Saleh, E. Ju, S. Gao, R. Panat, Sensing of COVID-19 antibodies in seconds via aerosol jet nanoprinted reduced-graphene-oxide-coated 3D electrodes, Adv. Mater. 33 (2021), 2006647.
[134] G. Seo, G. Lee, M.J. Kim, S.-H. Baek, M. Choi, K.B. Ku, C.-S. Lee, S. Jun, D. Park, H.G. Kim, Rapid detection of COVID-19 causative virus (SARS-CoV-2) in human nasopharyngeal swab specimens using field-effect transistor-based biosensor, ACS Nano 14 (2020) 5135-5142.
[135] R.L. Pinals, F. Ledesma, D. Yang, N. Navarro, S. Jeong, J.E. Pak, L. Kuo, Y.C. Chuang, Y.-W. Cheng, H.-Y. Sun, Rapid SARS-CoV-2 detection by carbon nanotube-based near-infrared nanosensors, medRxiv (2020) 2011-2020.
[136] P.K. Sharma, E.-S. Kim, S. Mishra, E. Ganbold, R.-S. Seong, A.K. Kaushik, N.Y. Kim, Ultrasensitive and reusable graphene oxide-modified doubleinterdigitated capacitive (DIDC) sensing chip for detecting SARS-CoV-2, ACS Sens. 6 (2021) 3468-3476.
[137] Y. Badhe, R. Gupta, B. Rai, In silico design of peptides with binding to the receptor binding domain (RBD) of the SARS-CoV-2 and their utility in bio-sensor development for SARS-CoV-2 detection, RSC Adv. 11 (2021) 3816-3826.
[138] S.-Y. Cho, X. Jin, X. Gong, S. Yang, J. Cui, M.S. Strano, Antibody-free rapid detection of SARS-CoV-2 proteins using corona phase molecular recognition to accelerate development time, Anal. Chem. 93 (2021) 14685-14693.
[139] M. Samir, D. Salah, S. Donia, A. Kasry, Specific chemical modification of nanohole edges in membrane graphene for protein binding, ACS Appl. Nano Mater. 5 (2022) 3733-3742.
[140] D. Beduk, J.I. de Oliveira Filho, T. Beduk, D. Harmanci, F. Zihnioglu, C. Cicek, R. Sertoz, B. Arda, T. Goksel, K. Turhan, All in One"SARS-CoV-2 variant recognition platform: machine learning-enabled point of care diagnostics, Biosens. Bioelectron. X 10 (2022), 100105.
[141] A. Romagnoli, M. D'Agostino, E. Pavoni, C. Ardiccioni, S. Motta, P. Crippa, G. Biagetti, V. Notarstefano, J. Rexha, N. Perta, SARS-CoV-2 multi-variant rapid detector based on graphene transistor functionalized with an engineered dimeric ACE2 receptor, Nano Today 48 (2023), 101729.
[142] G. Martins, J.L. Gogola, L.H. Budni, M.A. Papi, M.A.T. Bom, M.L.T. Budel, E.M. de Souza, M. Müller-Santos, B.C.B. Beirão, C.E. Banks, Novel approach based on GQD-PHB as anchoring platform for the development of SARS-CoV-2 electrochemical immunosensor, Anal. Chim. Acta 1232 (2022), 340442.
[143] Z. Sheffield, M. Alafeef, P. Moitra, P. Ray, D. Pan, N-Gene-Complementary antisense-oligonucleotide directed molecular aggregation of dual-colour carbon dots, leading to efficient fluorometric sensing of SARS-COV-2 RNA, Nanoscale 14 (2022) 5112-5120.
[144] J. Ju, X. Zhang, L. Li, S. Regmi, G. Yang, S. Tang, Development of fluorescent lateral flow immunoassay for SARS-CoV-2-specific IgM and IgG based on aggregation-induced emission carbon dots, Front. Bioeng. Biotechnol. (2022) 10.
[145] W. Shao, M.R. Shurin, S.E. Wheeler, X. He, A. Star, Rapid detection of SARS-CoV2 antigens using high-purity semiconducting single-walled carbon nanotubebased field-effect transistors, ACS Appl. Mater. Interfaces 13 (2021) 10321-10327.
[146] H.A. Hussein, A. Kandeil, M. Gomaa, R. Mohamed El Nashar, I.M. El-Sherbiny, R. Y.A. Hassan, SARS-CoV-2-Impedimetric biosensor: virus-imprinted chips for early and rapid diagnosis, ACS Sens. 6 (2021) 4098-4107.
[147] C. Tortolini, A. Angeloni, R. Antiochia, A comparative study of voltammetric vs impedimetric immunosensor for rapid SARS-CoV-2 detection at the point-of-care, Electroanalysis 35 (4) (2022). April 2023 e202200349.
[148] T. Li, S.D. Soelberg, Z. Taylor, V. Sakthivelpathi, C.E. Furlong, J.-H. Kim, S. Ahn, P.D. Han, L.M. Starita, J. Zhu, Highly sensitive immunoresistive sensor for point-of-care screening for COVID-19, Biosensors 12 (2022) 149.
[149] F. Curti, S. Fortunati, W. Knoll, M. Giannetto, R. Corradini, A. Bertucci, M. Careri, A folding-based electrochemical aptasensor for the single-step detection of the SARS-CoV-2 spike protein, ACS Appl. Mater. Interfaces 14 (2022) 19204-19211.
[150] N. Farsaeivahid, C. Grenier, S. Nazarian, M.L. Wang, A rapid label-free disposable electrochemical salivary point-of-care sensor for SARS-CoV-2 detection and quantification, Sensors 23 (2022) 433.
[151] J. Cui, X. Gong, S.-Y. Cho, X. Jin, S. Yang, R. Khosravi-Far, M.S. Strano, Understanding oligonucleotide hybridization and the role of anchoring on the single-walled carbon nanotube corona phase for viral sensing applications, J. Phys. Chem. C 127 (1) (2022) 606-620.
[152] W. Bäumler, D. Eckl, T. Holzmann, W. Schneider-Brachert, Antimicrobial coatings for environmental surfaces in hospitals: a potential new pillar for prevention strategies in hygiene, Crit. Rev. Microbiol. 48 (2022) 531-564.
[153] N. Jamshidinia, F. Mohammadipanah, Nanomaterial-augmented formulation of disinfectants and antiseptics in controlling SARS CoV-2, Food Environ. Virol. 14 (2022) 105-119.
[154] F. Sousa-Cardoso, R. Teixeira-Santos, F.J.M. Mergulhão, Antifouling performance of carbon-based coatings for marine applications: a systematic review, Antibiotics 11 (2022) 1102.
[155] A. Hashmi, V. Nayak, K.R. Singh, B. Jain, M. Baid, F. Alexis, A.K. Singh, Potentialities of graphene and its allied derivatives to combat against SARS-CoV-2 infection, Mater. Today Adv. 13 (2022), 100208.
[156] G. Reina, D. Iglesias, P. Samorì, A. Bianco, Graphene: a disruptive opportunity for COVID-19 and future pandemics? Adv. Mater. 33 (2021), 2007847.
[157] A.J. Galante, K.A. Yates, E.G. Romanowski, R.M.Q. Shanks, P.W. Leu, Coalderived functionalized nano-graphene oxide for bleach washable, durable antiviral fabric coatings, ACS Appl. Nano Mater. 5 (2022) 718-728.
[158] F. De Maio, G. Santarelli, V. Palmieri, G. Perini, A. Salustri, I. Palucci, G. Delli Carpini, A. Augello, M. Sanguinetti, M. De Spirito, Graphene-curcumin coatings resistant to SARS-CoV-2 and mycobacteria for the production of personal protective equipment, J. Nat. Fibers 20 (2023), 2156020.
[159] Z. Lin, Z. Wang, X. Zhang, D. Diao, Superhydrophobic, photo-sterilize, and reusable mask based on graphene nanosheet-embedded carbon (GNEC) film, Nano Res. 14 (2021) 1110-1115.
[160] M. Goswami, A.K. Yadav, V. Chauhan, N. Singh, S. Kumar, A. Das, V. Yadav, A. Mandal, J.K. Tiwari, H. Siddiqui, Facile development of graphene-based air filters mounted on a 3D printed mask for COVID-19, J. Sci. Adv. Mater. Devices 6 (2021) 407-414.
[161] X. Shan, H. Zhang, C. Liu, L. Yu, Y. Di, X. Zhang, L. Dong, Z. Gan, Reusable selfsterilization masks based on electrothermal graphene filters, ACS Appl. Mater. Interfaces 12 (2020) 56579-56586.
[162] M.G. Stanford, J.T. Li, Y. Chen, E.A. McHugh, A. Liopo, H. Xiao, J.M. Tour, Selfsterilizing laser-induced graphene bacterial air filter, ACS Nano 13 (2019) 11912-11920.
[163] D.S. Kinnamon, S. Krishnan, S. Brosler, E. Sun, S. Prasad, Screen printed graphene oxide textile biosensor for applications in inexpensive and wearable point-ofexposure detection of influenza for at-risk populations, J. Electrochem. Soc. 165 (2018) B3084-B3090.
[164] Y. Wang, C. Pan, W. Chu, A.K. Vipin, L. Sun, Environmental remediation applications of carbon nanotubes and graphene oxide: adsorption and catalysis, Nanomaterials 9 (2019) 439.
[165] U. Chadha, S.K. Selvaraj, S.V. Thanu, V. Cholapadath, A.M. Abraham, M. Manoharan, V. Paramsivam, A review of the function of using carbon nanomaterials in membrane filtration for contaminant removal from wastewater, Mater. Res. Express 9 (2022), 12003.
[166] V. Palmieri, L. Di Pietro, G. Perini, M. Barba, O. Parolini, M. De Spirito, W. Lattanzi, M. Papi, Graphene oxide nano-concentrators selectively modulate RNA trapping according to metal cations in solution, Front. Bioeng. Biotechnol. 8 (2020) 421.
[167] M. Papi, V. Palmieri, S. Palchetti, D. Pozzi, L. Digiacomo, E. Guadagno, M. del Basso De Caro, M. Di Domenico, S. Ricci, R. Pani, Exploitation of nanoparticleprotein interactions for early disease detection, Appl. Phys. Lett. 114 (2019), 163702.
[168] F. De Maio, V. Palmieri, A. Salustri, G. Perini, M. Sanguinetti, M. De Spirito, G. Delogu, M. Papi, Graphene oxide prevents mycobacteria entry in macrophages through extracellular entrapment, Nanoscale Adv. (2019).
[169] S. Zhou, M. Jin, R. Tan, Z. Shen, J. Yin, Z. Qiu, Z. Chen, D. Shi, H. Li, Z. Yang, A reduced graphene oxide-Fe3O4 composite functionalized with
cetyltrimethylammonium bromide for efficient adsorption of SARS-CoV-2 spike pseudovirus and human enteric viruses, Chemosphere 291 (2022), 132995.
[170] W. Sun, L. Hui, Q. Yang, G. Zhao, Nanofiltration filter paper based on multiwalled carbon nanotubes and cellulose filter papers, RSC Adv. 11 (2021) 1194-1199.
[171] L. Issman, B. Graves, J. Terrones, M. Hosmillo, R. Qiao, M. Glerum, S. Yeshurun, M. Pick, I. Goodfellow, J. Elliott, Filtration of viral aerosols via a hybrid carbon nanotube active filter, Carbon N. Y. 183 (2021) 232-242.
[172] A. Gowri, N.A. Kumar, B.S.S. Anand, Recent advances in nanomaterials based biosensors for point of care (PoC) diagnosis of COVID-19-a minireview, TrAC Trends Anal. Chem. 137 (2021), 116205.
[173] N.U. Benson, D.E. Bassey, T. Palanisami, COVID pollution: impact of COVID-19 pandemic on global plastic waste footprint, Heliyon 7 (2021), e06343.
[174] F. Saliu, M. Veronelli, C. Raguso, D. Barana, P. Galli, M. Lasagni, The release process of microfibers: from surgical face masks into the marine environment, Environ. Adv. 4 (2021), 100042.
[175] A.L.P. Silva, J.C. Prata, T.R. Walker, A.C. Duarte, W. Ouyang, D. Barcelò, T. Rocha-Santos, Increased plastic pollution due to COVID-19 pandemic: challenges and recommendations, Chem. Eng. J. 405 (2021), 126683.
[176] M. Henley, Global water treatment trends and issues, in: Water-Formed Deposits, Elsevier, 2022, pp. 635-655.
[177] A. Cornelio, A. Zanoletti, S. Federici, L. Ciacci, L.E. Depero, E. Bontempi, Environmental impact of surgical masks consumption in Italy due to COVID-19 pandemic, Materials 15 (2022) 2046.
[178] S.M. Figueroa, D. Fleischmann, A. Goepferich, Biomedical nanoparticle design: what we can learn from viruses, J. Contr. Release 329 (2021) 552-569.
[179] T. Wang, X. Fang, T. Wen, J. Liu, Z. Zhai, Z. Wang, J. Meng, Y. Yang, C. Wang, $\mathrm{H} . \mathrm{Xu}$, Synthetic neutralizing peptides inhibit the host cell binding of spike protein and block infection of SARS-CoV-2, J. Med. Chem. 64 (2021) 14887-14894.
[180] F. De Maio, V. Palmieri, M. De Spirito, G. Delogu, M. Papi, Carbon nanomaterials: a new way against tuberculosis, Expet Rev. Med. Dev. 16 (2019) 863-875.
[181] F. De Maio, V. Palmieri, G. Santarelli, G. Perini, A. Salustri, I. Palucci, M. Sali, J. Gervasoni, A. Primiano, G. Ciasca, Graphene oxide-linezolid combination as potential new anti-tuberculosis treatment, Nanomaterials 10 (2020) 1431.
[182] V. Cagno, C. Tintori, A. Civra, R. Cavalli, M. Tiberi, L. Botta, A. Brai, G. Poli, C. Tapparel, D. Lembo, Novel broad spectrum virucidal molecules against enveloped viruses, PLoS One 13 (2018), e0208333.
[183] T.M. Rawson, R.C. Wilson, A. Holmes, Understanding the role of bacterial and fungal infection in COVID-19, Clin. Microbiol. Infect. 27 (2021) 9-11.
[184] W.H. Chong, B.K. Saha, A. Ramani, A. Chopra, State-of-the-Art review of secondary pulmonary infections in patients with COVID-19 pneumonia, Infection 49 (2021) 591-605.
[185] M. Rueca, B. Bartolini, C.E.M. Gruber, A. Piralla, F. Baldanti, E. Giombini, F. Messina, L. Marchioni, G. Ippolito, A. Di Caro, Compartmentalized replication of SARS-cov-2 in upper vs. Lower respiratory tract assessed by whole genome quasispecies analysis, Microorganisms 8 (2020) 1302.
[186] R. Vaishya, M. Javaid, I.H. Khan, A. Haleem, Artificial intelligence (AI) applications for COVID-19 pandemic, Diabetes Metab. Syndr. Clin. Res. Rev. 14 (2020) 337-339.
[187] J. García-Machorro, G.L. Ramírez-Salinas, M. Martinez-Archundia, J. CorreaBasurto, The advantage of using immunoinformatic tools on vaccine design and development for coronavirus, Vaccines 10 (2022) 1844.
[188] G.D. Amoutzias, M. Nikolaidis, E. Tryfonopoulou, K. Chlichlia, P. Markoulatos, S. G. Oliver, The remarkable evolutionary plasticity of coronaviruses by mutation and recombination: insights for the COVID-19 pandemic and the future evolutionary paths of SARS-CoV-2, Viruses 14 (2022) 78.


[^0]:    * Corresponding author. Fondazione Policlinico Universitario "A. Gemelli" IRCSS, Largo A. Gemelli, 8 00168, Rome, Italy.
    ** Corresponding author. Fondazione Policlinico Universitario "A. Gemelli" IRCSS, Largo A. Gemelli, 8 00168, Rome, Italy.
    E-mail addresses: massimiliano.papi@unicatt.it (M. Papi), valentina.palmieri@cnr.it (V. Palmieri).

